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摘要 
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摘  要 
BaCu2Se2和 BiCuSeO 具有较低的热导率和较高的 Seebeck 系数，是两种极
具应用潜力的 p 型铜硫族化合物热电材料，但这两种材料电导率较低，导致 ZT
值较小，因而提高 ZT 值成为其实际应用的关键。本文主要采用元素掺杂提高
BaCu2Se2和 BiCuSeO 的电导率，提高 ZT 值。采用 X 射线衍射仪、扫描电子显
微镜、透射电子显微镜、Hall 效应测试仪、Seebeck 系数/电导率综合测试系统
和激光热导仪等研究 BaCu2Se2中 Na掺杂和 Ag掺杂以及 BiCuSeO中 Ba掺杂、
S 掺杂和热锻织构化对微观组织结构、输运特性和热电性能的影响规律和机制。 
采用 Na 和 Ag 掺杂分别提高 BaCu2Se2的载流子浓度和迁移率，以提高电
导率，提高 ZT 值。随 Na 掺杂量增加，Ba1-xNaxCu2Se2的载流子浓度大幅度增
大，电导率（σ）显著提高，Seebeck 系数（S）减小，导致功率因子（PF= S2σ）




时达到最大，773K 时为 1。适量 Ag 等电位取代 BaCu2Se2中的 Cu 提高了载流
子迁移率，提高电导率和功率因子，改善其热电性能，使室温 ZT 值由 0.018 提
高至 0.034。 
采用 Ba 掺杂提高 BiCuSeO 的载流子浓度，以提高电导率，提高 ZT 值。
Ba 掺杂量增加，Bi1-xBaxCuSeO 的载流子浓度大幅度增加，使电导率显著提高，
而 Seebeck系数减小，导致功率因子在 Ba掺杂量为 x=0.125时出现峰值，在 923K
为 6.33μWcm-1K-2。电导率的提高使电子热导率增大；同时 Bi 与 Ba 的原子质量
和离子尺寸波动加重晶格畸变，增强声子散射，使晶格热导率减小，并且 κele
增加幅度大于 κlat，因此总热导率增大。最终，随 Ba 掺杂量增加，ZT 值先升高
后降低，x=0.125 时 ZT 值在 923K 达 1.1。Bi1-xBaxCuSeO 经 923K 保温 1 周后热
电性能无变化，呈现出良好的稳定性。 





ZT⊥值提高，923K 时达 1.4。 
采用 S 掺杂，降低 BiCuSeO 的成本，同时降低热导率。在 x=0~1 范围内，
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II 
BiCuSe1-xSxO 可形成近纯相固溶体。随着 S 替代量增加，BiCuSe1-xSxO 的晶格
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Abstract 
BaCu2Se2 and BiCuSeO, as two kinds of promising p-type copper-chalcogenide 
based thermoelectric materials, have low thermal conductivity and high Seebck 
coefficient. But the low electrical conductivity results in low ZT value. Therefore, 
improvement of electrical conductivity is the key issue for their practical application. 
In this thesis, doping was carried out to increase electrical conductivity of BaCu2Se2 
and BiCuSeO, and further improve their ZT value. Influence of doping on the 
microstructure, transport behavior and thermoelectric properties of BaCu2Se2 and 
BiCuSeO was investigated by XRD, SEM, TEM, Hall measurement, ZEM-3 
and laser flash diffusivity apparatus. Meanwhile, the related mechanism was also 
investigated. 
In order to improve electrical conductivity and ZT value, Na doping and Ag 
doping were developed to increase carrier concentration and mobility of BaCu2Se2, 
respectively. As Na doping content increased, carrier concentration of 
Ba1-xNaxCu2Se2 increased obviously, electrical conductivity(σ) and Seebeck 
coefficient(S) was increased and decreased, respectively. The maximum power 
factor(PF) of 8.1μWcm-1K-2 at 773K was obtained when x=0.075. Lattice thermal 
conductivity(κlat) decreased slightly as Na doping increasing, while electronic 
thermal conductivity(κele) increased due to the improved electrical conductivity. 
According to the equation ZT=(S
2σ/κtot)T, ZT first increased and then decreased with 
the increasing Na doping amount. Maximum ZT of 1 at 773K was obtained when 
x=0.075. Proper amount of Ag substitution in the BaCu2Se2 increased the carrier 
mobility. Therefore, the electrical conductivity and PF was improved. Room 
temerpature ZT was enhanced from 0.018 to 0.034. 
    Ba doping was chosen in BiCuSeO to increase the carrier concentration, thus 
improve the electrical conductivity and ZT. As Ba doping concentration increased, 
carrier concentration of Bi1-xBaxCuSeO increased remarkably, leading to electrical 
conductivity and Seebeck coefficient increase and decrease, respectively. Therefore, 
the maximum PF of 6.33μWcm-1K-2 at 923K was obtained when x=0.125. 
Electronic thermal conductivity was increased because of the improved electrical 
conductivity after Ba doping, while lattice thermal conductivity was decreased due 
to enhanced phonon scattering by the fluctuation of atomic mass and size between 
Ba and Bi. The increase of κele surpassed reduction of κlat, so κtot increased after Ba 
doping. As a concequence, ZT first increased and then decreased. The maximum ZT 
of 1.1 at 923K was obtained when x=0.125. The thermoelectric properties of 




their good thermal stability. 
Taking the advantage of the anisotropic characteristics of BiCuSeO, hot forging 
method was applied on the Ba heavily doped BiCuSeO to induce texture and 
improve the carrier mobility and electrical conductivity. For the direction 
perpendicular to the pressure, with the increase of hot forging times, carrier 
mobility(μ⊥), electrical conductivity(σ⊥) and thermal conductivity(κ⊥) increased. In 
contrast, transport behavior showed a reverse regulation in the direction parallal to 
the pressure. Seebeck coefficient and carrier concentration were still unchanged 
after hot forging. σ⊥/κ⊥ increased while σ∥/κ∥ decreased as increasing hot forging 
times, consequently, ZT⊥ was boosted to 1.4 at 923K after three times hot forging. 
S doping was applied to decrease the cost and thermal conductivity of 
BiCuSeO. Nearly pure phase BiCuSe1-xSxO solid solution can be formed within 
x=0~1. Lattice parameters of BiCuSe1-xSxO decreased linearly as increasing S 
content, obeying the Vegard’s law. Ab initio calculation for BiCuChO(Ch=S, Se) 
indicated that Cu-Ch bonding had strong covalent characteristic, while Bi-Ch 
bonding that connected (Bi2O2)
2+
 layer with (Cu2Ch2)
2-
 layer had strong inoic 
characteristic. When Se was partially substituted by S, atomic mass and size 
difference between Se and S induced lattice distortion and intensified phonon 
scattering, so their thermal conductivity was lower than those of BiCuSeO and 
BiCuSO. 
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主要符号及其意义 
 
η: 转换效率或简约费米能级 Z: 热电优值参数 
T: 绝对温度 S: Seebeck 系数或散射系数 
σ: 电导率 κ: 热导率 
κB: 波尔兹曼常数                     e: 电子电荷量 
γ: 散射因子或 Gruneisen 常数 n: 载流子浓度或简并度 
m
*
: 有效质量 h: 普朗克常数 
Fn(ξ): 费米积分 ξ: 费米能级 
EF: 费米能级 ρ: 电阻率或密度 
μ: 迁移率 τ0: 弛豫时间 
L: 洛伦兹常数 ∆T: 温差 
J: 电流密度 E: 电场 
v: 载流子速度 q: 载流子带电量 
RH: 霍尔系数温差 l: 样品厚度或平均自由程 
Cv: 定容比热 va: 平均声速 
vl: 纵波声速 vs: 横波声速 
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的指标为热电优值（ZT 值）[4]，热电材料的转换效率（η）由 ZT 值决定[5]，













                (1-1) 







                          (1-2) 




前商用热电材料的 ZT 值小于 1.0，热电转换效率约为 5%-10%。提高 ZT 值是
热电材料研究领域永恒的热点。  
目前应用的传统热电材料包括 Bi2Te3 基、PbTe 基和 SiGe 基等，其中 Te
和 Ge 元素的储量稀少、价格高；Pb 有毒，污染环境、危害人们健康。所以开
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发环境友好、低成本的新型热电材料尤为迫切。在铜的硫族化合物当中，
BaCu2Se2和 BiCuSeO 具有较低的热导率和较高的 Seebeck 系数，不含有毒元
素和高成本元素，是两种具有开发潜力的中温热电材料。但是它们的电导率较
低，导致 ZT 值低，限制应用。本论文的研究目的是通过掺杂及微观组织结构
调控等方法提高 BaCu2Se2和 BiCuSeO 的电导率，改善热电性能。这对于丰富
热电材料体系和热电材料理论具有重要的指导意义。 
  
图 1-1 热电器件的能量转换效率与 ZT 值和温度的关系曲线 






有六方层状结构，空间群为 R-3m，具有较强的各向异性。当 Te 替代 Bi 位置
时形成施主掺杂，当 Bi 替代 Te 时形成受主掺杂。所以 Bi2Te3既可以被制造成
p 型又可以被制造成 n 型材料，为了降低其热导率，在 p 型材料中通常采用 Sb
取代 Bi，而在 n 型材料中通常采用 Se 取代 Te。虽然 Bi2Te3已经得到了商业化
应用，但通过掺杂、成分调整等可进一步提高其性能。Bi2Te3基热电材料的制
备方法包括区熔法[7]、定向凝固法[8]、热压法[9-10]、SPS 法[11-12]等。Yamashita
等人[13-15]采用传统的定向凝固法制备了 Te 过量的 p 型 Bi0.5Sb1.5Te3和 I、CuBr
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掺杂的 n 型 Bi2(Te0.94Se0.06)3，经过退火和优化成分后，在 p 型和 n 型材料中分
别得到了最高 ZT值为 1.41和 1.13的 Bi2Te3基热电材料。Chung等人
[16]在Bi2Te3
的层状结构中间嵌入 Cs，制得一种新型合金 CsBi4Te6，由于这种新型材料具
有很低的热导率，它的 ZT 值在 225K 时高达 0.8。在 Bi2Te3-Bi2Sb3超晶格量子
阱中 ZT 可高达 2.4[17]。 
1.2.2 中温热电材料 
中温热电材料中，PbTe 是一种研究历史最久的传统热电材料，自 1960 年
以来，ZT 值为 0.8 的 PbTe 基材料多次被成功地应用于 NASA 宇航任务中。近
年来，PbTe 基热电材料得到长足的发展。Pei 等人[18]在 PbTe 中重掺杂 Na，将
载流子浓度提高至 1020cm-3，并且由于费米面附近态密度的急剧增大使
Seebeck 系数具有很大提高，ZT 值提高至 1.4@750K。他们还通过掺杂调控实
现 PbTe1-xSex块体材料的多能谷汇聚，850K 时 ZT 值达到 1.8
[19]。Zhang 等人[20]
在 PbTe1−xSex固溶体中掺杂 K，发现 Se 可以改变固溶体中的电负性平衡，增
加 K 在固溶体中的固溶度，但富 Te 固溶体的平均 ZT 值大于富 Se 的固溶体。
Girard 等人[21]在掺杂 12%Na 的 PbTe-PbS 固溶体中发现了形貌可控的 PbS 纳
米结构，降低了晶格热导率。一般而言，块体材料中的纳米结构在降低热导率
的同时也会增加载流子散射，降低载流子迁移率，但是 Biswas 等人[22]通过在








于立方点群晶体 Im 。晶体结构是由八个 XY6（X=Co、Rh、Ir；Y=P、As、
Sb）八面体共角相接组成。CoAs3 结构可以看做一种严重扭曲的 AB3 钙钛矿













YbxCo4Sb12 和 CeyFexCo4-xSb12 作为 p 型和 n 型材料具有较高的 ZT 值，在
600-800K 这些材料的 ZT 值均能达到 1 以上。 
 
图 1-2 方钴矿 CoSb3的晶体结构
[24,32]
 
Fig 1-2 Crystal structure of the skutterudite CoSb3
[24,32]
 
a) unit cell of skutterudite structure, b) the structure shifted by the fractional coordinates 1/4, 
1/4, 1/4 from the unit cell 
具有MgAgAs晶体结构的Half-Heusler合金也是近年来研究较多的一种中
温热电材料，由三个相互贯穿的面心立方亚晶格和一个中空的亚晶格组成，通
式为 XYZ，其中 X 和 Y 是过渡族金属，Z 是主族元素[32-34]。Half-Heusler 合
金较容易合成，并且熔点较高，约为 1373-1573K，化学和热稳定性好。图 1-3
所示为 MNiSn 的晶体结构，其中 Ni 占据面心立方的格点位置，内部的 M 和
Sn 构成立方体结构。Full-Heusler 合金为金属，它的亚晶格格点全部被占满，
而 Half-Heusler 合金中的 Ni 空位使它具有窄带隙[35-37]，赋予了该材料较大的
有效质量和较大的温差电压[38]。 
Half-Heusler 合金中三套填充的亚晶格是相互独立的，可进行成分调控来
优化热电性能。例如，在 Sn 位置进行掺杂可以提高载流子浓度，而在 Ti 和
Ni 位置掺杂可以引起质量波动而降低热导率。Half-Heusler 合金作为热电材料
最吸引人的优势是较大的 Seebeck 系数（约为 100μVK-1，300K）和较高的电
导率（1000-10000Scm-1，300K）导致其具有较高的功率因子[39-43]。 
Half-Heusler 合金的种类较多，其中 ZnNiSn 是研究最多且最具有应用前
景的热电材料。Sb掺杂的 TiNiSn合金在 650K具有 70 Wcm-1K-2的功率因子[43]，
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道， n 型 Zr0.5Hf0.5Ni0.8Pd0.2Sn0.99Sb0.01的 ZT 值在 800K 时约为 0.7
[44]。Sakurada
等人报道，n 型(Zr0.5Hf0.5)0.5Ti0.5NiSn1-ySby在 700K 时 ZT 值为 1.4
[45]。此外，
研究者们对约 30种 Half-Heusler合金的热电性能进行了理论计算[46]，其中 Co、
Rh 和 Fe 基 Half-Heusler 合金有潜力作为 p 型热电材料，而 LaPdBi 等有望作
为 n 型热电材料。 
 
图 1-3 MNiSn 的晶体结构[35] 
Fig.1-3 Crystal structure of MNiSn
[35] 
笼状化合物具有由多个 Al、Ga、Si、Ge 或 Sn 四面体协调组成的开放式
框架结构，热导率普遍较低。笼状化合物热电材料的晶体结构主要有 I 型和
VIII 型两大类，它们的晶体结构框架都是由正电性较大的原子构成的笼状结构，
如图 1-4 所示。第一类（I 型）笼状结构的表达式为 X2Y6E46，E 表示形成框架
结构的原子，X 和 Y 表示“客”原子。它包括两种：第一种晶体结构是由 E20





成分优化后，Sr8Ga16Ge30和 Ba8In16Sn30的 ZT值可达到 0.5@300K和 1.7@800K。
通过 Czochralski 方法制备的 Ba8Ga16Ge30，在 900K 时，Seebeck 系数、电导率
和热导率分别为 150μV-1K-1、600Scm-1和 1.25Wm-1K-1，ZT 为 1.35[50]。第二类
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图 1-4 笼状化合物的晶体结构 [32] 
Fig.1-4 Crystal structure of clathrate
[32]
 
a) type I clathrate, Na8Si46, b) type VIII clathrate, Eu8Ga16Ge30 
Zintl 相是近年备受关注的一种热电材料，具有复杂晶体结构和窄带隙的
特点，可大范围调控成分改善其热电性能。这类材料是由碱金属、碱土金属或
稀土元素和ⅡB 族或ⅢA 族元素与ⅤB 族元素等组成的多元金属间化合物。
Zintl 相热电材料物具有“电子晶体-声子玻璃”的热电输运特性，共价键结合
的阴离子层亚结构使该类材料具有高的载流子迁移率。在 Zintl 相化合物中，
β-Zn4Sb3 是一种极有潜质的中温 p 型热电材料，它具有很低的热导率
[52]。图
1-5 所示为 β-Zn4Sb3的晶体结构，它具有一个 Zn 位和两个独立的 Sb 位。Sb1
和 Sb2 位分别是 Sb3-和 Sb2
4-，容易造成无序结构，并可以在大范围内调整化
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度有限。即使与结构相同的 Cd4Sb3形成 (Zn，Cd)4Sb3固溶体，在 673K时 Cd4Sb3
的固溶极限也只有 6mol%[55]。目前报道的 β-Zn4Sb3最高 ZT 值为 1.3@670K
[56]，
但作为热电材料 β-Zn4Sb3的缺点是稳定性差，在 841K开始分解为 ZnSb和 Zn。 
氧化物作为热电材料的优点在于其优良的热和化学稳定性。总体上，大部
分氧化物载流子浓度较低，导电性差。但层状的 NaxCoO2 具有类似金属的导
电性和较大的 Seebeck 系数[57]。单晶 NaCo2O4的室温 Seebeck 系数和电导率分
别为 100μVK-1和 5000Scm-1，功率因子为 50Wcm-1K-2，800K 时，ZT 可达到 1




















Fig.1-6 Crystal structure of NaCoO2
[59] 
目前报道的 n 型氧化物热电材料 ZT 值均低于 p 型。性能较好的 n 型氧化
物热电材料有 SrTiO3，重掺杂 La 和 Nb 后，1000K 时 ZT 值分别达到 0.37 和
0.26
[65]。1000K 时，Al 掺杂 ZnO 的 ZT 值约为 0.3[66,67]，室温到 1000K 时表现
出 n 型金属导电特性，具有较大的功率因子，约为 8-15μWcm-1K-2，但其热导
率较高，约为 40-50Wm-1K-1。图 1-7 所示为各种氧化物材料的热电优值。  
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图 1-7 氧化物热电材料的 ZT 值[68] 
Fig.1-7 ZT of oxide thermoelectric materials
[68] 
1.2.3 高温热电材料 
Si-Ge 合金的应用范围为 1000K 以上，它已经成功的应用于一些深空探测
器中，例如在 Cassini 号土星探测器的放射性同位素温差电池中，热电转换器
件即采用 Si-Ge合金所制备。块体 Si-Ge合金在高温下本身具有较高的 ZT 值，
Ge 含量为 20–30%时，p 型和 n 型材料的 ZT 值分别可达 0.7 和 1[69,70]。采用纳
米化降低热导率后，其热电性能可进一步提高。Joshi 等人[70]采用高能球磨结
合热压烧结，制备了纳米结构 Si-Ge 块体材料。由于纳米晶界对声子的强散射
降低热导率，ZT 值提高到了 1。Zebarjadi 等人[71]采用调制掺杂，在未掺杂块
体材料基体中加入掺杂的纳米颗粒，使载流子从纳米颗粒中分离出来，进入到
未掺杂的基体中，导致杂质离子对载流子的散射减弱，提高材料的载流子迁移
率，最终大幅提高了材料的功率因子。对 Si1-xGex纳米材料在 1275K 热处理 1
年后，材料的热电性能仍然没有发生变化，这说明在这一温度区间 Si1-xGex纳
米结构材料是稳定的[72]。 
Yb14MnSb11 是一种性能良好的 p 型热电材料，在高温下其热电性能可与
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个 Yb2+组成。随着温度的变化，Yb14MnSb11表现出弱金属或半金属特性。1200K













Fig.1-8 The crystal structure of Yb14MnSb11
[73] 
1.3 热电材料的掺杂改性及微观组织结构调控 





















n B                (1-4) 



































































流子浓度增大，电导率 σ升高，但 Seebeck 系数降低，热导率升高，因此在某
一载流子浓度范围，ZT 会出现一个极值，这一浓度即为最佳载流子浓度。将












                    (1-8) 







Dehkordi 等人[76]研究了 Pr 掺杂对多晶 SrTiO3输运特性的影响。理论计算
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-1，与理论计算结果一致，如图 1-10 所示。Guo 等人[77]通过 Fe 和
Te 掺杂降低了 Mo3-xFexSb7中的 p 型载流子浓度，增加了其 Seebeck 系数同时
降低其热导率，当 x=0.4 时载流子浓度达到最优，ZT 值为 0.34@800K。Zhang
等人[78]采用 Gd 掺杂调控 CuGaTe2的载流子浓度提高其电导率，降低了其热导
率，使其 ZT 值提高至 0.75@737K。 
 
图 1-9 电导率、Seebeck 系数、热导率、功率因子和 ZT 值与载流子浓度的关系[6] 
Fig.1-9 Electric conductivity, Seebeck coefficient, thermal conductivity, power factor 
and ZT value as a function of carrier concentration
[6] 
 
图 1-10 计算和实验所得电性能与载流子浓度的关系（方块表示实验结果）[76] 
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到抑制。Zhan 等人[80]在 n 型热电材料 Bi2O2Se 中使用 Sn 替代 Bi，提高了材料
的电导率，将 ZT 值提高了 4 倍，如图 1-11 所示。Kabir 等人[81]使用 Bi 替代




因子提高至 4.67×10-4Wm-1K-2， ZT 值提高至 0.25@923K。Li 等人 [82]在





的范围内变化，优化了功率因子和热电性能。同时，Fe 对 Cu 的取代还会散射
声子降低晶格热导率，因而材料的热电性能提高了 50%以上。最近，SnSe 和
SnS 因其无毒、价格低廉以及优异的热电性能引起了研究者们的兴趣。Tan 等




-3（掺杂 Ag1%），并发现 Ag掺杂量为 0.5%时样品的热电性能达到最优，
功率因子由 1 Wm-1K-1提高至 3 Wm-1K-1，ZT 值由 873K 时的 0.16 提高至 923K
时的 0.6。 
 
图 1-11 Bi2−xSnxO2Se 的热电性能与温度的关系
[80]
 
Fig.1-11 Thermoelectric properties of Bi2−xSnxO2Se as a function of temperature
[80] 
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  (1-9) 
从式（1-9）中可见，增强迁移率 μ 或载流子浓度 n 与能量 E 的依赖关系
可以提高 Seebeck 系数。例如，产生能级共振、提高费米面附近态密度可导致
有效质量增大和 Seebeck 系数提高。Heremans 等人[86]报道了 Tl 掺杂能够引起
PbTe 中费米面附近态密度增大，费米能级附近能量积分因此增大，导致有效
质量增大、Seebeck 系数提高，最终使 PbTe 的 ZT 值提高至 1.5，如图 1-12 所
示。Wang 等人在 β-Zn4Sb3中掺杂 Pr 元素
[91]，引起了态密度共振，使 β-Zn4Sb3
的有效质量提高了两倍，Seebeck 系数提高了 40-50μV/K。此外，根据 PbTe
和 PbSe 的能带结构特点，Pei 等人[18]通过合金化的方法调节了化合物中轻、
重能带的相对位置。发现当轻、重能带对传输共同起作用时，电学性能大幅度
提高。如图 1-13 所示，Banik 等人[88]在 SnTe 中采用 2-10%的 Mg 进行合金化，
增大了 SnTe 的带隙宽度，调整了其能带结构，减小了 SnTe 化合物中轻空穴
带和重空穴带的能量差异，从而增加了重空穴带对电学性能的贡献，导致
Seebeck 系数和功率因子显著增加。最终在 Mg 掺杂量为 9%的样品中得到了最
高 ZT 值为 0.94@860K。 
 
图 1-12 共振能级对电子态密度影响的示意图 [86] 
Fig.1-12 Scheme of the effect of a resonant level on the electronic density of states (DOS)
 [86] 
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图 1-13 Mg 掺杂 SnTe 能带结构示意图和 ZT 值与温度变化关系[88] 
Fig.1-13 Band structure and ZT of Mg doped SnTe as a function of temperature
[88] 
Tan 等人[89]采用第一原理计算了 PbCh(Ch=S、Se、Te)中 Mn 掺杂对其能
带结构和热电性能的影响，如图 1-14 所示。Mn 掺杂会增大 PbTe 的带隙，提
高价带的简并度，并得到实验验证。这种能带调整结果是由于 Te p 轨道和 Mn 
d 轨道的反键态引起的。在 PbTe-PbSe-PbS 系列材料中，Mn 掺杂使阴离子 p
轨道向低处移动，导致能带类型由多价带型向共振态型转变。Zeier 等人[90]研
究了晶格常数对 Cu2MGeSe4能带结构和热电性能的影响。在 Cu2MGeSe4中由





图 1-14 Pb1−xMnxSe 和 Pb1−xMnxS 局部态密度示意图
[89]
 
Fig.1-14 Partial DOS in Pb1−xMnxSe and Pb1−xMnxS 
[89] 
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低维化可有效地改善热电性能；随后在 p 型 PbTe 中，理论和实验均证实当量
子阱尺寸为 4nm 以下时，S2n 比块体 PbTe 有显著体高，这里 n 是载流子浓度。




图 1-15 各维度材料态密度（DOS）与能量关系示意图[91] 


















高度，将会进一步提高 ZT 值，如图 1-16 所示。 
a) b) c) d) 
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图 1-16 PbTe−Ag2Te 纳米线异质节的能带结构示意图、TEM 形貌和 ZT 值与温度关系
[94]
 
Fig.1-16 Band structure, TEM image and ZT of PbTe−Ag2Te nanowire
[94]
 









率降低，结合电导率的提高，x=0.8 时 ZT 值被提高至 0.82，比 SnS 提高了 4
倍，如图 1-17 所示。在 CePd3-xPtx 固溶体中，由于 Pd（106.42amu）和 Pt
（195.08amu）较大的质量差，掺杂的 Pt 原子起到了缺陷散射中心的作用，晶
格热导率降低 50%，固溶体的 ZT 值在 300K 时提高了 30%[96]。 




Fig.1-17 Thermoelectric properties of SnS1-xSex as a function of temperature
[95]
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迁移率降低程度超过热导率降低程度时，固溶体的方法则无法提高材料的热电
性能。在 n 型 (PbTe)1–x(PbSe) x固溶体中（0≤x≤1），载流子迁移率降低抵消






球磨合金化合成的 Bi2Te3容易形成薄片形状，并且由于 c 轴方向容易解
理，薄片的表面平行于(0001)晶面，在烧结致密化的过程中，材料在垂直于
压力的方向上会产生沿着 [0001]方向的织构 [98-102]。在这种具有强织构的
Bi2Te3 基热电材料中，垂直于 c 轴方向的热电性能可以与单晶媲美。具有失
配层结构的钴酸盐氧化物在致密化过程中也可通过机械作用力使材料排列取
向[103-107]。在这些具有层状结构的钴酸盐化合物中，沿着 c 轴方向的电阻率
大于 a-b 晶面的电阻率。例如，Mikami 等人采用热锻方法使多晶 Ca3Co4O9
沿 c 轴择优取向，使其功率因子比未取向的材料提高了 6-7 倍[104]。Motohashi 
等人通过等轴压缩，使[(Bi, Pb)2Ba2O4±w]0.5CoO2沿着 c 轴发生择优取向，功
率因子提高了 4 倍[106]。晶粒取向的程度由于变形量的不同而不同。据报道，
在热锻 Bi2.5Ca2.5Co2Ox 中，位于材料芯部沿 c 轴的择优取向程度比材料表面
弱[107]。 
由于晶体中的滑移系在外加剪切压力的作用下会旋转，可以通过塑性变
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1981 年在多晶 SiGe 合金中首次实现了通过减小晶粒尺寸、增加晶界散射
来降低热导率，进而提高其 ZT 值。与单晶 SiGe 相比，晶粒尺寸为 1µm 的多
晶 SiGe 具有更高的 ZT 值[126]。后来研究者们使用晶圆级制造技术制造了尺寸
为 50nm 的 Si 纳米线，与块体材料相比，它的热导率可以降低 100 倍，300K
时 ZT 可达到 0.6[127]。在其它传统热电材料如 Bi2Te3和方钴矿等材料中也能够
通过细化晶粒改善热电性能。研究者将 p 型(Bi,Sb)2Te3块体材料在 Ar 气氛保
护下高能球磨得到了晶粒尺寸约为 50nm 的粉体，随后将粉末热压烧结成型，
制备出具有纳米晶结构的块体材料。结果显示，晶格热导率比未经球磨样品降
低了 50%，373K 时 ZT 值达到 1.4[128]。Sun 等人通过球磨法使 Bi2Se3的晶粒尺
寸由微米级减小至 80nm。由于晶界散射加剧，样品的晶格热导率降低了
30-50%。细化晶粒后样品 ZT值均被提高，其中最高值为 0.63@570K[129]。Toprak
等[130] 研究了晶粒尺寸为 1900nm 至 140nm 的多晶 CoSb3的热电性能，结果表
明，晶格热导率随着晶粒尺寸减小而逐渐降低。在晶粒尺寸最小的材料中，晶
格热导率降低至 1.5W m−1K−1，比单晶中降低了一个数量级。在内部晶粒尺寸






InSb–Sb 共熔合金中提拉出的晶体，在 InSb 基体中形成了厚度为 4µm 的棒状
Sb，随着 Sb 棒状结构尺寸的减小至纳米级，热导率显著降低[131]。但是由于
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母相和析出相晶界是共格的，样品的电导率和 Seebeck 系数没有降低。Kim 等
人[132]在 In0.47Ga0.53As 母相中嵌入 ErAs 纳米颗粒，所嵌入的纳米颗粒尺寸约




































































在 BaCu2Se2的研究方面，目前已有一些研究小组报道了 BaCu2Ch2 （Ch=S、 
Se和 Te）的晶体结构以及输运特性[148-150]。对于 Ch= S和 Se，存在正交 BaCu2S2
型和四方 ThCr2Si2型两种稳定的晶体结构，而对于 BaCu2Te2只有正交 BaCu2S2
结构是稳定存在的[151,152]。室温下，β-BaCu2S2和 α-BaCu2Se2的电导率均较低，
分别为 49Scm-1[149]和 5.5Scm-1[150]，BaCu2Te2 的电导率为 125Scm
-1。在
β-BaCu2S2 中进行 K 掺杂可将其电导率提高一个数量级。BaCu2Ch2（Ch=S，
Se 和 Te）具有较高的 Seebeck 系数，从 S 到 Te 分别为 216μVK-1、390μVK-1 和 
127μVK-1；并且同其它的铜硫族化合物一样，它们具有较低的热导率，室温下





1.4.3 BiCuSeO 热电材料的掺杂改性 
BiCuSeO 是 LnCuChO（Ln=La、Bi、Mo、Ce，Ch=S、Se、Te）层状氧化
物中的一种，于 1993 年首次由 Kholodkovskaya[154]等人报道，当时被作为一种
具有层状结构的超导体来研究。随后，研究者们通过固相反应 [155-159]、水热法
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的 ZT 值为 0.4，通过 Sr 掺杂可提高 BiCuSeO 的载流子浓度和电导率使其 ZT
值提高至 0.9。随后，研究者们通过制造 Cu 空位或在 Bi 位置掺杂碱土金属
Mg 或 Ca 元素提高 BiCuSeO 的载流子浓度，提高了其 ZT 值。Liu 等人[165]采
用在 BiCuSeO 的 Cu 位置制造空位的方法提高电导率，将 ZT 值提高为 923K
时 0.81。Mg 掺杂能够使 BiCuSeO 的电导率提高至 50Scm-1，ZT 值提高至 923K
时 0.7。Ca 掺杂也能有效的提高载流子浓度，从而提高 BiCuSeO 的电导率和
ZT 值[166]。 
通过 Se 位置 Te 掺杂、Cu 位置 Ag 掺杂改变能带结构也能够提高 BiCuSeO
的热电优值。Se位置 Te掺杂 6%后 BiCuSeO的禁带宽度由 0.8eV降低至 0.65eV，
禁带宽度的变窄使少子能够发生跃迁导致样品的电导率提高，ZT 值增大至
0.71，如图 1-18 所示[167]。在 Se 位置掺杂 Te 的基础上，在 Bi 位置 Sr 掺杂则
能够更大幅度的提高 BiCuSeO 的电导率，但由于 Seebeck 系数降低严重，在
大量 Te 掺杂的情况下进行 Sr 掺杂不能有效提高 BiCuSeO 的热电性能[168]。在
Cu 位置 Ag 掺杂后由于禁带宽度变窄，BiCuSeO 的电导率可被提高两个数量
级，因而电性能得到了有效改善[169]。但是这些改进方法均未能使 BiCuSeO 的
ZT 值达到 1，因此需要进一步改善其热电性能。  
哈尔滨工业大学工学博士学位论文 
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图 1-18 BiCuSe1-xTexO 禁带宽度变化示意图和电导率与温度的关系
[167]
 




a) sheme of band gap change, b) electrical conductivity as function of temperature 
1.5 主要研究内容 
BaCu2Se2和 BiCuSeO 均具有低的本征热导率和较高的 Seebeck 系数，根
据 ZT=S2σ/κ，这两个特性有望使该材料具有较高的 ZT 值。但 BaCu2Se2 和




（1）采用固相反应法结合放电等离子体烧结制备 Na 掺杂和 Ag 掺杂的
BaCu2Se2热电材料。研究 Na 掺杂和 Ag 掺杂对 BaCu2Se2的晶体结构、禁带宽
度、输运特性和热电性能的影响规律和机制，并考察 BaCu2Se2 作为热电材料
的稳定性。 
（2）采用固相反应法结合放电等离子体烧结制备 Ba 掺杂 BiCuSeO，研究
Ba 掺杂量对 BiCuSeO 的晶体结构、输运特性和热电性能的影响规律及机制，
并考察其热电性能的稳定性。 




同 S 含量对 BiCuSeO 的晶体结构、能带结构以及热、电输运特性的影响规律
及机制。 
a) b) 
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第 2 章 试验材料及方法 
2.1 试验材料 
试验所用材料如表 2-1 所示。 
表 2-1 试验所用材料 
Table 2-1 Materials used for experiment 
试剂名称 化学式 纯度 生产厂家 
钡 Ba 99.9% Alfa Aesar 
钠 Na 99.9% Alfa Aesar 
银 Ag 99.99% Alfa Aesar 
氧化铋  Bi2O3 99.99% Alfa Aesar 
铋 Bi 99.9% Alfa Aesar 
铜 Cu 99.9% Alfa Aesar 
硒 Se 99.999% Alfa Aesar 
硫化铋 Bi2S3 99.9% Alfa Aesar 
硫化亚铜 Cu2S 99.9% Alfa Aesar 
氧化钡  BaO 99.95% Alfa Aesar 
所有样品均由固相反应法合成，经过放电等离子体烧结（SPS）或热压烧
结（HP）成型。 
采用固相反应法制备 Ba1-xNaxCu2Se2和 BaCu2-yAgySe2粉体，利用 SPS 将其
烧结成型。实验所用 BaSe 和 Na2Se 均为自制。在制备过程中为防止 Ba 或 Na
与石英壁发生反应，均在石英管内壁做涂碳处理。BaSe 的制备方法如下：将
Ba 小块和 Se 粉末封在涂碳膜的真空石英管中，在 873K 烧结 24h 得到 BaSe，
经 XRD 检测所得 BaSe 为纯相，如图 2-1 所示。Na2Se 的制备方法如下：将 Na
和 Se 封在涂碳膜的真空石英管中，缓慢加热到 1123K，保温 4h 后随炉冷却到
室温。将化学计量比的 BaSe、Cu、Se 和 Na2Se 或 Ag 粉末在研钵中混合均匀，
冷压成块。封入涂碳膜的真空石英管中，在马弗炉中 958K 烧结 48h。所得
Ba1-xNaxCu2Se2和 BaCu2-yAgySe2研磨成粉末后，通过 SPS 在 723K、100MPa、
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图 2-1 BaSe 的 XRD 图 
Fig.2-1 XRD pattern of BaSe 
Bi1-xBaxCuSeO 样品采用两步固相反应法合成，然后使用热压烧结成型。称
量化学计量比的 Bi、Bi2O3、Cu、Se、BaO 粉末，在研钵中研磨混合均匀，冷
压成 φ12mm 的圆柱，封入真空石英管，在马弗炉中 573K 烧结 12h；所得块体
研磨成粉末，并再次冷压成块体、封入真空石英管，在马弗炉中 973K 烧结 24h。
冷却后将产物球磨成粉末，球磨工艺为：球料比 10：1，在手套箱氩气保护中
装罐，球磨机转速 400r/min，每球磨 30min 后停歇 5min 使球磨罐冷却，累计球
磨时间 8h。所得粉末在真空中用放电等离子烧结（SPS）成 φ20×8mm 的圆片，
烧结工艺为：973K 烧结 6min，压强为 60MPa。本实验中 SPS 烧结使用模具均
为高强石墨模具，样品与模具之间使用石墨纸隔离，便于烧结后样品脱模。  
采用上述两步固相反应法制备 Bi0.875Ba0.125CuSeO 粉末。将制得的
Bi0.875Ba0.125CuSeO 粉末在 923K、60MPa 热压烧结成 φ12mm 的致密圆柱。所得
圆柱表面打磨干净后放到 φ15mm 的模具中进行第一次热锻，在热压烧结炉中
973K、50MPa、真空条件下热锻成 φ15mm 的圆柱；所得圆柱表面打磨干净后
放到 φ20mm 的模具中进行第二次热锻，在热压烧结炉中 973K、30MPa 热锻成
φ20mm 的圆柱；将二次热锻所得圆柱表面打磨干净，再放到 φ25mm 的模具中
进行第三次热锻，在 973K、30MPa 热锻成 φ25mm 的圆柱。 
BiCuSe1-xSxO 样品采用两步固相反应法合成，并用 SPS 烧结成型。称量化
学计量比的 Bi、Bi2O3、Bi2S3、Cu、Cu2S、S、Se 粉末，在研钵中研磨混合均
匀，冷压成块体，封入真空石英管中，在马弗炉中 623K 烧结 15h，随炉冷却
到室温后将第一步产物研磨成粉末，并再次在手套箱中冷压成块体，封入真空
石英管，在马弗炉中 873K 烧结 168h。由于 S 元素容易挥发，升温速率控制在
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50K/h，从而保证原材料及时反应，减缓 S 的挥发。所得块体研磨成粉末，在氩
气保护下用 SPS 烧结成 φ15×4mm 的致密圆片，烧结工艺为 773K 烧结 10min，
压强为 100MPa。 
2.2 结构表征 
采用 Panalytical 公司的 X’Pert型 X 射线衍射仪分析样品的物相组成，使用
Cu-Kα辐射源，波长为 1.5406Å，步长为 0.02°，扫描范围 2θ=20-70°或 20-90°， 
扫描时间为 1h。测试高温 XRD 谱时，将样品放在 Anton Paar TTK 样品室中，
使用 Bruker D8 Advance 衍射仪，在氩气保护下进行测试。使用 FULLPROF 对
所得 XRD 谱精修计算分析，得到各样品晶格常数及化合物中的键长长度、键角
角度等信息。 
采用 Hitachi S-3400N VP-SEM 型场发射扫描电镜观察材料的微观形貌，使
用该电镜附带的 X 射线光谱（EDS）表征样品的元素分布。SEM 表征的样品经
过切割、预磨后由颗粒直径为 50nm 的 Al2O3抛光砂纸抛光制备。 
采用 TESCAN MIRA 3 LMH 扫描电镜对样品做电子背散射衍射（EBSD）
分析，电压为 30KV。EBSD 样品采用传统方法经过切割、预磨和抛光制备。 
采用日本电子 JEOL 2100F型透射电镜表征材料的微观形貌，电压为 200KV。
透射电镜样品使用传统方法经过切割、磨薄、冲孔、抛光和 Ar 离子减薄制备。 
2.3 基本物性表征 
采用 Setaram Setsys Evo ETTLER TGA/SDTA851e 差热分析仪测试粉末及
块体样品的 DSC 及 TG 曲线，加热速率为 5Kmin-1。 












                     (2-1) 
M0 为空气中测试所得样品的干重；M1 为饱和样品在空气中的湿重；M2 为饱和
样品在水中的浮重；ρH2O(T)为测试温度为 T 时的去离子水密度。 
2.4 热电性能测试 
采用日本 Ulvac-Riko 公司 ZEM-3 型 Seebeck 系数/电导率综合测试系统测
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试样品的电导率和 Seebeck 系数，测试原理如图 2-2 所示。样品尺寸为
3×3×10mm 的条形样品，测试过程中样品室内通入氦气保证样品不被氧化。测








),( 21                           (2-2) 
可以得到 Seebeck 系数。实际测量过程中还需要扣除导线和热电偶的
Seebeck 系数，来得到样品的准确 Seebeck 系数。 
电导率的测试原理如下：样品两端通过一电流，测出 A、B 之间的电压 U1，











图 2-2 室温以上 Seebeck 系数及电导率测试原理示意图 
Fig.2-2 Scheme for measurement of Seebeck coeffecinet and electrical conductivity above room 
temperature 
 













AB 间电压 V1 
标准电阻电压 V2 
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部无制冷器，升温速度较快，所以在样品两端的铜片之间产生温度差。通过热




图 2-3 室温以下 Seebeck 系数及电导率测试原理示意图 
Fig.2-3 Scheme for measurement of Seebeck coeffecinet and electrical conductivity below room 
temperature 
采用美国 Quantum Design 公司 PPMS-9T 物理性能测试系统测试霍尔系数
RH，利用 RH和电导率，根据公式       计算载流子迁移率。磁场为 2T，测
试所用样品为厚度为 0.5-1mm 的方形薄片。测试原理：如图 2-4 所示，半导体
中通过电流 Ix，如果施加一个垂直于电场方向的磁场，磁场强度为 Bz，载流子
在运动过程中受到洛伦兹力的作用，将沿着 y 方向运动，在 y 方向上形成一个
电场 Ey。当载流子受电场 Ey的库仑力作用与受磁场洛伦兹力作用相等时，材料
内部载流子受力达到了平衡。此时 Eyq=qvBz，Ey=vBz 其中 q 为载流子带电量，
v 为载流子运动速度。电流密度 J=nqv，其中 n 为载流子密度。所以 
nq
JB
E zy                            (2-4) 
其中 1/nq=RH，叫做 Hall 系数，单位为 m
3
/C。 
通过 Hall 电压 VH可算出 Hall 系数 RH。样品的长度、宽度和厚度分别为 l，
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图 2-4 Hall 效应测试原理示意图 
Fig.2-4 Scheme for measurement of Hall effect 













                          (2-6) 
可见测出 t1/2就能算出样品的热扩散系数。 
样品的比热容 Cp采用标样比较法由激光热导仪测试得到。样品总热导率由
关系式：κtot=DCpρ 计算得到。其中 κtot为总热导率，D 为热扩散系数，Cp为比
热容，ρ为密度。 
热导率测量误差为 8%，最终所得 ZT 值的误差为 15%。 
 
图 2-5 热扩散系数测试原理示意图 
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2.5 能带结构计算 
使用 ab initio 代码 CRYSTAL09 计算能带结构。根据局域化原子高斯型基
函数计算晶体轨道，与分子计算中所采用的原子轨道线性组合(LCAO)相似。使
用密度泛函（B3LYP）方法解特征方程，杂化 B3LYP 函数使用 Becke’s 交换和 
Lee-Yang-Parr 相关函数计算，第一布里渊区中 Κ 点的数目是 75。分别采用
Hay-Wadt 大核赝势、Durand 和 Barthelat 有效核赝势构建 Se/Cu 和 Bi 的核电子
模型。
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3.2 BaCu2Se2的 Na 掺杂改性 
BaCu2Se2具有 α和 β两种相
[148]，晶体结构分别如图 3-1 a)和 b)所示。α相
BaCu2Se2属于正交晶系，其中 Cu-Se 网状结构构成了它的主要框架，这种 CuSe4
之间互相共边共顶点连接成网状结构；Ba 原子位于 Cu-Se 网络结构的通道中。
β相 BaCu2Se2属于四方晶系，具有 I4/mmm 点群；它具有由 Cu-Se 层和 Ba 层交
替堆垛组成的层状结构。 
 
图 3-1 BaCu2Se2的晶体结构 
    Fig.3-1 Crystal structure of BaCu2Se2 
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图 3-2 a)为 BaCu2Se2粉末的 XRD 图以及 Rietveld 精修图谱，通过固相反应
法所合成的BaCu2Se2为 α相。实验测得的XRD图与精修所得XRD图吻合良好。
未掺杂样品的晶格常数为 a = 9.575 Å、b = 4.202 Å、c = 10.755 Å。图 3-2 b)为
SPS 后 BaCu2Se2块体材料垂直于压力方向的 XRD 图。BaCu2Se2的晶体结构为
各向异性，而由图 3-2 b)可见，SPS 前后 XRD 衍射峰强度均一致，说明 SPS 后
的 BaCu2Se2块体材料内无择优取向。 
 
图 3-2 BaCu2Se2 粉末的 XRD 图、Rietveld 精修图和 BaCu2Se2块体的 XRD 图 
Fig.3-2 XRD pattern and Rietveld refinement pattern of BaCu2Se2 powder and XRD pattern of 
BaCu2Se2 bulk 
 a) XRD pattern and Rietveld refinement of BaCu2Se2 powder, b) XRD pattern of BaCu2Se2 
bulk 
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图 3-3 a)为 Ba1-xNaxCu2Se2（x=0，0.005，0.01，0.015，0.02，0.025，0.05，
0.075 和 0.1）样品的 XRD 图。所有衍射峰均与 BaCu2Se2 的标准 PDF 卡片
（PDF#79-1647）吻合，没有出现第二相的衍射峰，说明 Na 掺杂 BaCu2Se2 样
品均为纯相。由此精修计算所得各样品的晶格常数如图 3-3 b)所示。可见，晶
格常数随着 Na 掺杂量的增加无显著变化。Na+离子的半径（0.97Å）比 Ba2+ 离
子的半径（1.34Å）小 0.37 Å，但是由于 Ba2+离子位于 Cu-Se 网络结构的通道中，
因而 Na 取代 Ba 对 BaCu2Se2晶体的框架结构无影响，所以元胞的晶格常数没有
明显变化。这与 K 掺杂 β-BaCu2S2所得到的结果一致
[149]。 
 
图 3-3 Ba1-xNaxCu2Se2 的 XRD 图和晶格常数 
Fig.3-3 XRD patterns and lattice parameters of Ba1-xNaxCu2Se2  
a) XRD patterns, b) lattice parameters 
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图 3-4 为 Ba0.9Na0.1Cu2Se2的 SEM 形貌和各元素面分布图，从图中可看出，
各组成元素 Ba、Cu、Se 和 Na 分布均匀，再次说明 Na 元素掺入到了 BaCu2Se2
中。 
 
图 3-4 Ba0.9Na0.1Cu2Se2的 SEM 形貌和元素分布图 
Fig.3-4 SEM image and elemental maps of Ba0.9Na0.1Cu2Se2 
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图 3-5 为 BaCu2Se2和 Ba0.9Na0.1Cu2Se2的紫外-可见漫反射光谱，从图中可
见，BaCu2Se2 的禁带宽度约为 1.8eV，与 McGuire 等人
[150]所测得的结果一致。
BaCu2Se2和Ba0.9Na0.1Cu2Se2两个样品漫反射光谱的下降边对应着相同的横坐标
能量值，说明 Na 取代 Ba 未改变 BaCu2Se2的禁带宽度。在 BaCu2Se2的能带结
构中，价带顶和导带底主要是由 Se 4p 和 Cu 3d 轨道组成，Ba 的原子轨道对价
带顶和导带底均无贡献，所以 Na 对 Ba 的替代不影响价带顶或导带底的能级组
成，对禁带宽度无影响。 













Energy (eV)  
图 3-5 BaCu2Se2和 Ba0.9Na0.1Cu2Se2的漫反射光谱 































        (3-1) 
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Fig.3-6 Carrier concentration and mobility of Ba1-xNaxCu2Se2 as a function of Na 
doping content 
a) carrier concentration, b) carrier mobility 
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图3-7 Ba0.98Na0.02Cu2Se2的载流子迁移率随温度变化关系 
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图 3-8 Ba1-xNaxCu2Se2的电学性能随温度变化关系曲线 
Fig 3-8 Electrical properties of Ba1-xNaxCu2Se2 as a function of temperature 
a) electrical conductivity from 30K to 300K, b) electrical conductivity from 300K to 773K, 
c) Seebeck coefficient from 30K to 300K, d) Seebeck coefficient from 300K to 773K, 










 x=0         x=0.025    
 x=0.005  x=0.05
 x=0.01    x=0.075























































































































图 3-9 为 Ba1-xNaxCu2Se2的热输运特性随温度变化关系曲线。图 3-9 a)为从




-1，接近 Dulong-Petit 公式计算的结果 0.295Jg-1K-1，比热容随着
温度的升高而线性增大。一般情况下，在德拜温度 2 到 3 倍以上时，比热容不
再随着温度而变化，而成为一个常数，所以为了保守计算 ZT 值，高于 400K 以
上部分用已测得的数据的直线外延估算得到。图 3-9 b)为样品的热扩散系数。
由比热容和热扩散系数，根据式 κtot=DCpρ可计算出总热导率随着温度的变化关




样品的总热导率随着 Na 掺杂含量的增多而增大，Na 掺杂 x=0.1 时，总热导率
在 300K 为 1Wm-1K-1。但样品总热导率随着温度的升高而减小，这符合晶体化












































































































































S B                 (3-4) 
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Fn(η) 是 n阶费米积分，可以由式（3-5）算出： 













                      (3-5) 





                            (3-6) 
其中Ef 是费米能级，声学声子散射是主要的载流子散射机制，因此取γ= 
−1/2[2]。由式（3-3）计算所得洛伦兹因子随温度变化关系如图3-9d)所示。 
由图 3-9 e)可见，Ba1-xNaxCu2Se2的电子热导率随着 Na 掺杂量的增加而增
大。并且样品的电子热导率随着温度的升高而增大。为比较各样品的电子热导
率随温度升高而增加的幅度，计算了 773K与 300K时 κele的差值（∆(773K-300K)κele）， 










的晶格热导率为 0.84Wm-1K-1，773K 时降低至 0.41Wm-1K-1，这一数值比声子玻
璃电子晶体如方钴矿的晶格热导率 1.5Wm-1K-1[58,59]低得多。Ba1-xNaxCu2Se2的晶
格热导率随着 Na 掺杂量的增加出现小幅度降低，其中 Ba0.925Na0.075Cu2Se2的晶
格热导率最低，室温时为 0.76Wm-1K-1，773K 时降低至 0.38Wm-1K-1。一方面，
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图 3-9 Ba1-xNaxCu2Se2的热输运特性随温度变化关系 
Fig.3-9 Thermal transport properties of Ba1-xNaxCu2Se2 as a function of temperature 
a) Specific heat capacity, b) thermal diffusivity, c) total thermal conductivity, d) Lorenz number, 
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BaCu2Se2 具有较低热导率的原因分析如下：它具有大的平均原子质量
（84.47g/mol atom），以及大体积，且复杂的晶体结构，通常这些特征都使材料




根据以上电、热输运参数计算得到样品的 ZT 值随温度的变化关系如图 3-10
所示，Ba1-xNaxCu2Se2在 300K-773K 的平均 ZT 值如图 3-11 所示。虽然与高性能





[6-16]等相比，Na 掺杂 BaCu2Se2 的功率因子较低，但是它具有极低
的热导率，这使 BaCu2Se2 获得了较高的 ZT 值，773K 时，Na 掺杂量 x=0.075
的 ZT 值约为 1，这是目前第一次测得 BaCu2Se2在室温以上以及掺杂改性的 ZT
值。平均 ZT 值（ZTave）能够准确的反应温差发电的效率，在 300K-773K，
Ba0.99Na0.01Cu2Se2 的  ZTave 为 0.35，Na 掺杂量增加后 ZTave 被提高，其中
Ba0.925Na0.075Cu2Se2的平均 ZT 值最高，为 0.45。 
 
图 3-10 Ba1-xNaxCu2Se2的 ZT 值随温度变化关系 
Fig. 3-10 ZT of Ba1-xNaxCu2Se2 as a function of temperature 
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图 3-11 Ba1-xNaxCu2Se2的平均 ZT 值 
Fig. 3-11 Average ZT of Ba1-xNaxCu2Se2 








由于 BaCu2Se2的价带顶由 Cu 3d 轨道和 Se 4p 轨道构成，提高它们的位置可以
减小禁带宽度，与 Cu 的 3d 轨道相比 Ag 的 4d 轨道具有更高的能量，因此本节
使用 Ag 原子替代 Cu，提高价带顶位置，减小禁带宽度。 
图 3-12 a)和 b)分别为 BaCu2-yAgySe2（y=0、0.05、0.1、0.15 和 0.2）的 XRD
图和晶格常数与 Ag 掺杂量的关系。由图 3-12 a)可见，Ag 取代量 y＜0.2 时，
BaCu2-yAgySe2为纯相；y=0.2 时，样品中出现杂质相，图中 2θ=26°处的衍射峰
对应 Cu2Se 第二相。样品 XRD 衍射峰随着 Ag 掺杂量增加而向低角度移动，这
是由于晶格常数增大所致。与 Ba1-xNaxCu2Se2相比，Ag 替代对晶格常数具有显
著的影响，因为 Ag+离子进入到对 BaCu2Se2晶格常数起决定作用的 Cu-Se 框架
结构上。通过精修计算得到晶格常数随着 Ag含量的变化关系如图 3-12 b)所示。
由于 Ag+（1.26 Å）比 Cu+（0.96 Å)离子尺寸大，随着 Ag 掺杂量的增加，晶格
常数线性增大；并且由于晶体结构的各向异性，a、c 增加幅度比 b 增加幅度大。 
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图 3-12 BaCu2-yAgySe2的 XRD 图和晶格常数 
Fig.3-12 XRD patterns and lattice parameters of BaCu2-yAgySe2 
a) XRD patterns, b) lattice parameters 
图 3-13 为 BaCu1-yAgySe2 的低倍放大扫描电镜形貌和各元素面分布图。由
图可见，Ba、Ag、Cu 和 Se 在块体材料中均匀分布，结合上文晶格常数的线性
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图 3-13 BaCu1.85Ag0.15Se2的 SEM 形貌和元素分布图 
Fig.3-13 SEM image and elemental maps of BaCu1.85Ag0.15Se2 
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通过图 3-14 紫外-可见漫反射光谱可以看到，BaCu2-yAgySe2 样品的吸收带
边随着 Ag 替代量的增加而向低能量方向移动，Ag 替代 Cu 后 BaCu2-yAgySe2的
禁带宽度由 y=0 时 1.94eV 变窄为 y=0.15 时 1.86eV，究其原因为 Ag 的 d 轨道提
高了价带顶的位置。当 y＞0.15 时，吸收带边不再随着 Ag 含量的增加而改变，
这与 XRD 所得到的结果一致，是由于掺杂量 y＞0.15 后，掺杂达到了饱和。 
 
图 3-14 BaCu2-yAgySe2的漫反射光谱和禁带宽度 
Fig.3-14 Diffuse reflectance spectrum and band gap of BaCu2-yAgySe2 






























 y = 0
 y = 0.05
 y = 0.1
 y = 0.15
 y = 0.2
a)




























Fig.3-15 Carrier concentration and mobility of BaCu2-yAgySe2 as a function of Ag doping 
content at room temperature 
 
图 3-16 为 BaCu2-yAgySe2的电输运特性随温度的变化关系。由图 3-16 a) 可
见，所有样品的电导率随着温度的升高而升高，表现出半导体的导电特性。Ag
掺杂使 BaCu2Se2的电导率升高，其中 Ag 掺杂量 y=0.05 时导电性最好，室温电
导率为 8.2Scm-1。与 Na掺杂相比，Ag掺杂对 BaCu2Se2电导率提高的程度有限。
由于电导率的提高，Ag替代后样品的 Seebeck系数从 353μVK-1降低为 210μVK-1，
如图 3-16 b)所示。由电导率和 Seebeck 系数计算所得功率因子随着温度变化的






图 3-17 所示为 BaCu2-yAgySe2 的热输运特性随着温度的变化关系。与未掺





计算出 BaCu2-yAgySe2总热导率随温度的变化关系如图 3-17 b)所示。y=0.05 时，
样品的总热导率最高，室温时为 0.77Wm-1K-1，773K 时降低为 0.45Wm-1K-1。 
为分析室温时电子热导率和晶格热导率对总热导率的贡献，用式（3-2）计
算了电子热导率，其中洛伦兹因子 L 利用 Seebeck 系数根据式（3-3）拟合得到，
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从总热导率中扣除电子热导率得到了晶格热导率。图 3-18 a)和 b)分别是室温下
电子热导率和晶格热导率随 Ag 含量的变化关系。可以看出，BaCu2-yAgySe2 的
总热导率几乎全部来自于晶格热导率，Ag 掺杂之后晶格热导率增大，但是随着
Ag 含量的增加，晶格热导率减小，这是因为随着 Ag 掺杂量增多，点缺陷对声
子散射作用加强。结合以上电、热输运参数计算得，室温下 y=0、0.05、0.1 和
0.15 的样品 ZT 值分别为：0.018、0.034、0.025 和 0.0144。Ag 在 Cu 位置的替
代能够提高 BaCu2Se2的 ZT 值。 
 
图 3-16 BaCu2-yAgySe2的电学性能随温度变化关系 
Fig.3-16 Electrical properties of BaCu2-yAgySe2 as a function of temperature 
 a) electrical conductivity, b) Seebeck coefficient, c) power factor 
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图 3-17 BaCu2-yAgySe2的热输运特性随温度的变化关系 
Fig.3-17 Thermal transport properties of BaCu2-yAgySe2 as a function of temperature 
a) thermal diffusivity, b) total thermal conductivity 
 
 
图 3-18 BaCu2-yAgySe2的室温热输运特性与 Ag 掺杂量的关系 
Fig.3-18 Thermal transport properties as a function of Ag doping content at room temperature 
a) electronic thermal conductivity, b) lattice thermal conductivity 
3.4 BaCu2Se2热电材料的稳定性 
为进一步考察 BaCu2Se2实际应用的可行性，本文考察了 Na 掺杂 BaCu2Se2
在环境中的化学稳定性，使用 TG 分析 BaCu2Se2 的热稳定性，采用高温 XRD
研究 BaCu2Se2的热膨胀特性和高温时相结构的变化。 
Ba1-xNaxCu2Se2 粉末和块体均在真空条件下或者惰性气体保护下制备，在























































































第 3 章 BaCu2Se2热电材料的掺杂改性 
 - 49 - 
样品中，存在化学性质活泼的 Ba 和 Na 元素，容易与空气中的二氧化碳和水反
应，从而使材料发生分解而失效。为研究样品在空气中的稳定性，选择 Na 掺
杂含量最多的 Ba0.9Na0.1Cu2Se2粉末样品，分别在空气中放置一个月后，在水中
放置一周后使用 XRD 表征其相组成，结果如图 3-19 所示，在空气中放置一个

























Fig.3-19 XRD patterns of Ba0.9Na0.1Cu2Se2 after 1 month storage in air and after 1 week in 
water 
室温至 873K 之间 BaCu2Se2粉末样品的 XRD 谱如图 3-20 所示，从室温升
至 773K 过程中，样品一直为纯相，没有出现分解产生第二相。由于温度升高
材料晶格发生热膨胀，XRD 衍射峰的位置随着温度升高逐渐向低角度移动。当
温度高于 823K 时，在 2θ=25°处出现了杂质的衍射峰，说明 BaCu2Se2在 823K
以上开始发生分解。对变温 XRD 数据采用 Rietveld 精修计算，所得到的晶格常
数与温度变化关系如图 3-21 所示。由图可见，不同方向的晶格常数均随着温度
的升高而增大。由于晶体结构的各向异性，a、b、c 三个晶格常数的热膨胀率
也表现出各向异性，在 b 方向上的热膨胀系数比 a 和 c 大，热膨胀系数随着温  
哈尔滨工业大学工学博士学位论文 
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图 3-20 不同温度下 BaCu2Se2的 XRD 图 
Fig.3-20 XRD patterns of BaCu2Se2 at different temperature 
 
图 3-21 BaCu2Se2的晶格常数随温度的变化关系 
Fig.3-21 Lattice parameters of BaCu2Se2 as a function of temperature 
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度的升高而减小。a 和 c 的热膨胀系数在室温下和 873K 下分别为 30×10-6 K-1





图 3-22 为 BaCu2Se2粉末的 TG 曲线，BaCu2Se2从 510K 开始失重，随着温
度的升高失重加剧，温度 590K 以上 TG 呈现出失重量 63%的水平直线是由于样
品失重量达到了仪器测试的饱和量所致。 
 
图 3-22 BaCu2Se2粉末的 TG 曲线 
Fig.3-22 TG curve of BaCu2Se2 powder 
图 3-23 为经 TG 测试后粉末样品的 XRD 图，由图可见，经过 TG 测试后虽
然样品剧烈失重，但其相组成仍然为 BaCu2Se2 单相，说明 BaCu2Se2 的失重是
由于其挥发导致，并且在测试范围内（300K-823K）未发生分解，即 BaCu2Se2
从 510K 开始挥发，而分解温度高于 823K。这与高温下的 XRD 图所得到的结
论一致。 
为表征块体材料的挥发速率，分析了 BaCu2Se2块体材料在恒定温度下的失
重量随时间的变化。具体方法为在 473K 至 773K 之间，每 50K 取一个温度点，
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图 3-23 TG 测试前后 BaCu2Se2粉末样品的 XRD 图 
Fig.3-23 XRD patterns of samples before and after TG measurement 
 
 
图 3-24 块体样品在各温度下的失重随时间变化关系 
Fig.3-24 Weight loss of BaCu2Se2 bulk as a function of time at different temperature 
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3.5 本章小结 
本章研究了 Ba 位置 Na 掺杂和 Cu 位置 Ag 等电位取代对 BaCu2Se2晶体结
构及热电性能的影响规律，主要结论如下： 
（1）Na 掺杂量增加使 Ba1-xNaxCu2Se2载流子浓度增大，迁移率不变，电导
率升高，而使 Seebeck 系数下降，导致功率因子随 Na 掺杂量的增加先升高而后
降低，当Na掺杂量为 x=0.075时，功率因子达到最大值，在 773K为 8.1μWcm-1K-2。 
（2）Na 掺杂后 Ba1-xNaxCu2Se2的晶格热导率略有减小，而电子热导率显著
增大，导致总热导率增大。Na 掺杂在 Ba 位置而非 Cu-Se 框架结构，未引起大
的晶格畸变和严重声子散射，晶格热导率只有小幅度降低。然而 Na 掺杂使电
导率大幅度升高，电子热导率显著增大，因而总热导率增大。 
（3）随 Na 掺杂量增大，Ba1-xNaxCu2Se2 的 ZT 值提高，当 x=0.075 时 ZT
值达最高，在 773K 为 1；继续增加 Na 掺杂量，ZT 值呈下降趋势。 
（4）适量 Ag 掺杂可提高 BaCu2-yAgySe2的载流子迁移率，导致电导率升高，
功率因子增大，从而提高 ZT 值；当 y=0.05 时，室温 ZT 值由未掺杂的 0.018 提
高至 0.034。 
哈尔滨工业大学工学博士学位论文 
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第 4 章 BiCuSeO 热电材料的 Ba 掺杂改性 
4.1 引言 
BiCuSeO 具有较高的 Seebeck 系数和较低的热导率，但其电导率低导致 ZT
值较低。因此欲改善其热电性能，大幅度提高电导率是首选途径。BiCuSeO 是
p 型半导体，采用受主掺杂提高空穴浓度是改善其电导率的有效方法。本章采
用 Ba2+替代 BiCuSeO 中的 Bi3+，增大载流子浓度，提高电导率。采用两步固相
反应法合成 Bi1-xBaxCuSeO，研究了 Ba 掺杂对 BiCuSeO 的晶体结构及热电性能
的影响规律及机理，优化出最佳 Ba 掺杂量，并考察了 Bi1-xBaxCuSeO 热电性能
的稳定性。 
4.2 Ba 掺杂对微观结构的影响 
图 4-1 为原材料（Bi2O3、Bi、Cu 和 Se）、第一步和第二步反应之后的 XRD
图。将原材料在 573K 烧结 15h 后所得到样品的主相为 BiCuSeO，它具有
ZrSiCuAs 型晶体结构，主要衍射峰与标准卡片（PDF#82-0464）相吻合。但原
材料并未反应完全，样品中还含有少量 Bi2O3杂质，位于 2θ=25.6°、26.8°和 27.3°
处的衍射峰即对应 Bi2O3（PDF#71-2274）。并且此时由于反应温度较低、时间
较短，所得物质没有完全结晶。将第一步反应产物研磨混合均匀再次封管，于
1023K 烧结 24h 后，原材料完全反应，XRD 显示无杂相衍射峰，所得样品为纯
相 BiCuSeO。 
BiCuSeO 的晶体结构如图 4-2 所示，它属于四方结构，其中 a= 3.9273Å，
c=8.9293Å，z=2，空间点群为 P4/nmm (No.129，PDF 45-0296)。与所有的







 层由 BiO4四棱锥组成，其中存在两种 Bi-O-Bi 键角，分别为
~106.95° 和 ~114.65°。Bi和其周围的 O和 Se也可以看做是两个畸变的四棱锥，
Bi 在中心，一侧为 4 个 O 而另一侧为 4 个 Se。Bi-Se 的键长约为 3.2Å，大于
Bi-O 的键长（~2.33 Å），意味着 Bi-Se 键强度弱于 Bi-O 键，所以整个化合物可




四面体共用 Se-Se 边构成，其中存在两种 Se-Cu-Se 键角，分别为 102.6°~106.95° 
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子交换位置，即 Se 原子位于 Bi 的位置，Cu 原子位于 O 的位置。据文献，实
验测得 Cu-Se 键长约为 2.52Å，与 Cu+ 和 Se2-的离子半径之和相等，说明 Cu-Se
键是离子键。从精修计算可得知，BiCuSeO 中存在 Cu 空位[152]。 
 
图 4-1 不同反应阶段产物的 XRD 图 
Fig.4-1 XRD patterns of product after different stage of reaction 
 
图 4-2 BiCuSeO 的晶体结构图 
Fig.4-2 Crystal structure of BiCuSeO 

































































































图 4-3 Bi1-xBaxCuSeO 的 XRD 图和晶格常数 
Fig.4-3 XRD patterns and lattice parameters of Bi1-xBaxCuSeO 
 a) XRD patterns, b) lattice parameters 
在块体材料中引入尺寸适当的纳米结构，能够增加晶界数量，强烈地散射
声子而微弱地散射载流子，可有效地提高热电材料的 ZT 值。为了细化晶粒尺寸，
本文将固相反应所得的 Bi1-xBaxCuSeO 进行了球磨。图 4-4 和图 4-5 分别为球磨
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前后 Bi0.875Ba0.125CuSeO 粉末的 SEM 形貌和粒径分布统计。球磨前粉末的颗粒
尺寸分布较宽，从 0.5μm 至 10μm，平均颗粒尺寸为 3.3μm。球磨 8h 后，颗粒




图 4-4 球磨前后 Bi0.875Ba0.125CuSeO 粉末的 SEM 形貌 
Fig.4-4 SEM images of Bi0.875Ba0.125CuSeO powder before and after ball milling 
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图 4-5 球磨前后 Bi0.875Ba0.125CuSeO 粉末的粒径尺寸分布图 
Fig. 4-5 Grain size distribution of Bi0.875Ba0.125CuSeO powder before and after ball milling 
a) before ball milling, b) after ball milling for 8h 
 
图 4-6 SPS 烧结 BiCuSeO 块体的照片 
Fig.4-6 Photo of SPSed BiCuSeO bulk 
块体样品的 TEM 和断口 SEM 形貌如图 4-7 a)和 b)所示。块体样品内晶粒








和 Ba 分布均匀。结合衍射斑点和元素面分布说明 Ba2+离子进入到 BiCuSeO 晶
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格中并占据到晶格结点位置上。 
 
图 4-7 Bi0.875Ba0.125CuSeO 的 TEM 形貌、断口 SEM 形貌以及各元素面分布图 
Fig.4-7 TEM image, SEM fractography and element distributions of Bi0.875Ba0.125CuSeO 
a) TEM image, b) SEM fractography, the inset shows element distributions determined by EDX 





































































































图 4-8 Bi1-xBaxCuSeO 的载流子浓度和迁移率与 Ba 掺杂量的关系 
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图 4-9 Bi1-xBaxCuSeO 的电学性能随温度变化关系 
Fig.4-9 Electrical properties of Bi1-xBaxCuSeO as a function of temperature 
a) electrical conductivity, b) Seebeck coefficient, c) power factor 
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图 4-10 Bi1-xBaxCuSeO 的电学性能随载流子浓度变化关系 
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                          (4-2) 


























v                    (4-3) 
vl是纵波声速，为 3290m/s，vs是横波声速，为 1900m/s
[179]。l 取最小值，即原
子间距（在 BiCuSeO 中约为~3.0 Å）时所估算出的 κlat为最小晶格热导率。由
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                       (4-5) 
将纵向和横向声波速度 vl和 vs代入式（4-5），得到 BiCuSeO 的 Gruneisen
常数约为 1.5，这是一个较大的数值，说明 BiCuSeO 晶格的非谐性较强。 
与 BiCuSeO 相似，AgSbTe2也具有低的本征热导率和大的 Gruneisen 常数
（2.05）。AgSbTe2大的 Gruneisen 常数和强非谐性是由于 sp 杂化轨道中未成键
孤对电子的存在引起的[182]，而这些未成键的孤对电子来自于 Sb 原子的价层，
它们使 Sb 原子周围产生了电子云和非线性排斥力，即非谐性[182]。同样作为ⅴ
族元素，Bi 具有比 Sb 大的原子半径，所以 Bi 原子具有比 Sb 原子大的价层和
电子云，因此对于含 Bi3+的化合物，Bi 的孤对电子可能会引起电子密度更加不
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图 4-11 Bi1-xBaxCuSeO 的热输运特性随温度变化关系 
Fig.4-11 Thermal transport properties of Bi1-xBaxCuSeO as a function of temperature 
a) specific heat conpacity, b) thermal diffusivity, c) total thermal conductivity, d) Lorenz 
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图 4-12 Bi1-xBaxCuSeO 的 ZT 值随温度的变化关系 
Fig.4-12 ZT of Bi1-xBaxCuSeO as a function of temperature 
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表4-1 ZT>0.5的氧化物热电材料 
Table4-1 Oxide thermoelectric materials with ZT>0.5 
类型 材料 年份 温度(K) ZT 
p NaCo2O4 单晶
[183]
 2001 800 1 
 NaCo2O4 多晶
[184]
 2003 955  0.8 
 Ca3Co4O9 单晶晶须
[185]
 2000 ≥873 1.2-2.7 
 Bi2Sr2Co2Oy 晶须
[186]
 2002 973 1.2 
 Bi1-xBaxCuSeO多晶（本文） 2012 923K 1.1 
n Zn0.96Al0.02Ga0.02O多晶
[187]











图 4-13 Bi1-xBaxCuSeO 的 ZT 值随载流子浓度的变化关系 
Fig.4-13 ZT of Bi1-xBaxCuSeO as a function of carrier concentration 
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图 4-14 BiCuSeO 在氩气和空气中测试的 TG 和 DTA 曲线 
Fig.4-14 TG curves and DTA curves of BiCuSeO measured in argon and air 
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图4-15 923K保温168h前后Bi1-xBaxCuSeO的热电性能随温度变化关系 
Fig.4-15 Thermoelectric properties of Bi1-xBaxCuSeO before and after socking at 923K for 168h 
a) electrical conductivity, b) Seebeck coefficient, c) power factor, d) total thermal conductivity, 
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4.5 本章小结 
本章系统研究了 Ba 掺杂对 BiCuSeO 的晶体结构、输运特性和热电性能的
影响规律及机制，并考察了 Ba 掺杂 BiCuSeO 的热稳定性，主要结论如下： 
（1）采用两步固相反应与放电等离子体烧结相结合的方法制备出晶粒尺寸
200~400nm、纯相 Ba 掺杂 BiCuSeO 热电材料（Bi1-xBaxCuSeO）。 
（2）Ba 掺杂对 BiCuSeO 电性能有显著影响，随 Ba 掺杂量增加，载流子
浓度增大，迁移率减小，电导率升高；而 Seebeck 系数随 Ba 掺杂量增加而减小，
导致功率因子随 Ba掺杂量的增加先升高而后降低，当 Ba掺杂量为 x=0.125时，
功率因子达到最大值，在 923K 为 6.33μWcm-1K-2。 
（3）Ba 掺杂量增加，电导率升高，导致 Bi1-xBaxCuSeO 的电子热导率
（κele=LσT）增大；Ba 和 Bi 原子质量和尺寸不同引起声子散射增强，导致晶格
热导率减小。电子热导率增加的幅度大于晶格热导率的减小，因此热导率随 Ba
含量增加而增大。 
（4）ZT 值随着 Ba 掺杂量的增加而提高，当 Ba 掺杂量为 x=0.125 时，ZT
值最大，为 1.1@923K； Ba掺杂量继续增加，ZT值呈下降趋势。Ba掺杂 BiCuSeO
经 923K 保温 168 小时后，热电性能无明显变化，呈现出良好的热稳定性。 
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第 5 章 Ba 掺杂 BiCuSeO 热电材料的织构化改性 
5.1 引言 
在第 4 章中，采用 Ba 掺杂提高了 BiCuSeO 的载流子浓度和电导率，使
ZT 值提高到了 1.1。重掺杂后由于晶格畸变对载流子的散射和载流子间的散射










热电性能[191,192,196-198]。本章在 Ba 掺杂提高 BiCuSeO 载流子浓度的基础上，
选用 Ba 掺杂量最优的成分 Bi0.875Ba0.125CuSeO，通过热锻诱发织构，提高载流
子迁移率，进一步改善其电性能，提高 ZT 值。研究了热锻对 Bi0.875Ba0.125CuSeO
组织结构及热电性能的影响规律及机制。 
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图 5-1 Bi0.875Ba0.125CuSeO 经不同次数热锻后的照片 
Fig.5-1 Photoes of Bi0.875Ba0.125CuSeO after hot forging for different times 
 a) as-synthesized sample (0T), b) 1 time (1T), c) 2 times (2T), d) 3 times (3T) 
 
图 5-2 切割方向示意图 
Fig.5-2 Scheme of cutting directions 





第 5 章 Ba掺杂 BiCuSeO 热电材料的织构化改性 
 - 73 - 
 
 
图 5-3 织构化 Bi0.875Ba0.125CuSeO 的 XRD 图及 Lotgering 因子 
Fig.5-3 XRD patterns and Lotgering factor of textured Bi0.875Ba0.125CuSeO 
a) XRD patterns of textured Bi0.875Ba0.125CuSeO, b) magnification of a), 
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P                        (5-3) 
其中 I（00l）和 I（hkl)分别是织构化样品 XRD 图中（00l）晶面和（hkl）晶
面的衍射峰强度。而 I0 （00l） 和 I0 （hkl）分别是无织构样品的 XRD 图中
（00l）晶面和（hkl）晶面的衍射峰强度。本文中，I0（hkl）和 I0（hkl）数值
采用 (PDF#82-0464)卡片中数据。根据式（5-1）-（5-3）计算得到，随着热锻
次数增加，样品的 Lotgering 因子逐渐增大，分别为 0.12（0T-⊥）、0.36（1T-
⊥)、0.59（1T-⊥）和 0.82（3T-⊥），如图 5-3 c)所示，再次说明织构化程度
随着热锻次数增多而增强。 
图 5-4、5-6 和 5-7 为织构化 Bi0.875Ba0.125CuSeO 的微观组织结构分析，图 5-5
为热锻过程示意图。图 5-4 a)、e)、h)和 k)所示分别为 0T-⊥、1T-⊥、2T-⊥ 和 
3T-⊥样品的带衬度形貌，从中测量出晶粒尺寸分布情况如图 5-4 b)、f)、i)和 l)
所示。在垂直于压力方向上，未经过热锻的样品中，晶粒尺寸分布于 1μm 以
下，多数为 200-400nm；随着热锻次数增加，晶粒尺寸逐渐增大，1μm 以上的
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图 5-4 织构化 Bi0.875Ba0.125CuSeO 的带衬度图、晶粒尺寸分布图、Z-欧拉图和反极图 
Fig.5-4 Band contrast images, grain size distribution, Z-Euler images and inverse polefigures 
of textured Bi0.875Ba0.125CuSeO 
a), e), i), l) band contrast images of 0T-⊥,1T-⊥,2T-⊥and 3T-⊥ samples, respectively, 
b), f), j), m) grain size distribution of 0T-⊥,1T-⊥,2T-⊥and 3T-⊥ samples, respectively, 
 c), g), k), n) Z-Euler images of 0T-⊥,1T-⊥,2T-⊥and 3T-⊥ samples, respectively, 
 d), 0) inverse polefigures of 0T-⊥ and 3T-⊥ samples, h)color key 
 
图 5-5 热锻过程示意图 





a) b) ) c) 
d) 
e) f) g) 
h) 
i) j) k) 
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图 5-6 所示为样品的 X-、Y-、全欧拉图和极图。由图 5-6 a-c)可见，在 0T-⊥
样品中，晶粒随机取向，样品几乎为各向同性，其中只存在微弱的（00l）方
向择优取向，与 Z 欧拉图结果一致。热锻后 X 和 Y 欧拉图中都没有红色颗粒，
从极图中也可以看到随着热锻次数增加，样品内部颗粒的取向逐渐集中到（00l）
方向。图 5-7 为较大区域内 3T-⊥样品的带衬度图、欧拉图和反极图。可以看




图 5-6 织构化 Bi0.875Ba0.125CuSeO 的欧拉图和极图 
Fig.5-6 Euler images and pole images of textured Bi0.875Ba0.125CuSeO 
a), e), i), m) all-Euler images of 0T-⊥, 1T-⊥, 2T-⊥ -⊥ , 
b), f), j), n) X-Euler images of 0T-⊥, 1T-⊥, 2T-⊥ -⊥ , 
c), g), k), 0) Y-Euler images of 0T-⊥, 1T-⊥ -⊥ -⊥ , 
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图 5-7 经 3 次热锻后织构化 Bi0.875Ba0.125CuSeO 的欧拉图和反极图 
Fig.5-7 The Euler image and inverse pole image of textured Bi0.875Ba0.125CuSeO after 3 times 
hot forging 
a) band contrast image, b) X-Euler image, c) Z-Euler image 
d) inverse pole image along X direction, e) inverse pole image along Z direction 
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∥）的 0.96cm2V-1s-1。Ohtani 等人[202]研究发现，BiCuSeO 的载流子迁移率 μ







图 5-8 织构化 Bi0.875Ba0.125CuSeO 的载流子迁移率与热锻次数的关系 
Fig.5-8 Carrier mobility of textured Bi0.875Ba0.125CuSeO as a function of hot forging time 









































第 5 章 Ba掺杂 BiCuSeO 热电材料的织构化改性 








图 5-9 织构化 Bi0.875Ba0.125CuSeO 的电学性能随温度变化关系  
Fig.5-9 Electrical properties of textured Bi0.875Ba0.125CuSeO as a function of temperature 
a) electrical conductivity, b) Seebeck coefficient, c) power factor 
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从图 5-9 b)可见，Bi0.875Ba0.125CuSeO的 Seebeck系数不随热锻次数而改变，
并且 Seebeck 系数为各向同性，在垂直和平行于热锻压力方向上数值相同，室
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图 5-10 织构化 Bi0.875Ba0.125CuSeO 的热输运特性随温度变化关系 
Fig.5-10 Thermal transport properties of textured Bi0.875Ba0.125CuSeO as a function of 
temperature 
a) thermal diffusivity, b) specific heat capacity, c) total thermal conductivity, d) Lorenz 
number, e) electronic thermal conductivity, f) lattice thermal conductivity 
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图 5-11 织构化 Bi0.875Ba0.125CuSeO 的电导率与热导率比值随热锻次数变化关系 
Fig.5-11 Ratio of electrical conductivity with thermal conductivity of textured 
Bi0.875Ba0.125CuSeO as a function of hot forging time 
结合以上电、热输运参数计算得到样品的ZT值随温度变化关系如图5-12
所示。在垂直于热锻压力方向上，由于电导率的提高有效补偿了热导率提高，
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图 5-12 织构化 Bi0.875Ba0.125CuSeO 的 ZT 值随温度变化关系 





数增加，织构增强，热锻三次后 Lotgering 因子达到 0.82。 
（2）热锻后载流子浓度和 Seebeck 系数无明显变化，但随热锻次数增加，
垂直于热锻压力方向的迁移率（⊥）提高，电导率（⊥）升高，因而垂直于




提高，所以垂直于热锻压力方向的 ZT 值（ZT⊥）提高，三次热锻后 923K 时
ZT⊥值达 1.4；平行于热锻压力方向热电性能呈现相反的变化规律，热导率（
∥）降低，∥/∥降低，ZT 值（ZT∥）降低。 
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第 6 章 BiCuSeO 热电材料的 S 掺杂改性 
6.1 引言 
BiCuSO 和 BiCuSeO 具有相同的晶体结构，因此两种化合物之间有望形成
固溶度 100%的固溶体。利用 S 和 Se 原子质量和尺寸差异，诱发晶格畸变，
可增强声子散射，降低晶格热导率。S 元素的地壳储量（420ppm）比 Se 元素
（0.05ppm）更丰富[204]，在 BiCuSeO 中若能够使用 S 代替 Se，将降低 BiCuSeO
热电材料的成本，更利于其实际应用。本章采用 S 替代 Se，降低热导率和成
本。研究了 S 替代 BiCuSeO 中 Se 对晶体结构及热电输运特性的影响规律及机
制。 
6.2 S 掺杂对晶体结构的影响 
在第 4 章中我们探索了合成纯相 BiCuSeO 的工艺。为了得到相纯度高的
BiCuSe1-xSxO 样品，这一节中我们首先探索 BiCuSe1-xSxO 固溶体另一端点成分
BiCuSO 的制备工艺。研究了第二步固相反应的加热温度和时间对 BiCuSO 样
品相组成的影响。将原料粉末封入真空管，在 623K 反应 15h 后，所得产物再
次封管，在不同温度和反应时间进行第二步反应，最终产物的 XRD 图如图 6-1
所示。经过本实验所设定的工艺（773K 48h，873K 48h，873K 168h，973K 4h）
进行第二步反应后，所得产物的主相均为 BiCuSO，对应 PDF#46-0436 标准卡
片。除 BiCuSO 外，产物中含有不同量的杂质相。第二步反应采用 773K 加热
48h后，相组成中包括少量的 Bi单质和Bi2O3，XRD图中位于 2θ=27.1°、2θ=37.9°
和 2θ=39.6°处的衍射峰对应 Bi 单质 PDF#85-1329 标准卡片的衍射峰，位于
2θ=27.9°处的衍射峰对应 Bi2O3 PDF#22-0515 标准卡片的衍射峰。第二步反应
采用 873K 加热 48h 后，相组成中除 Bi 单质外，包括 Bi2S3杂质，XRD 图中
位于 2θ=28.5°处的衍射峰对应 Bi2S3 PDF#17-0320 标准卡片的衍射峰。当延长
反应时间，在 873K 反应 168h 后，产物中所得的 Bi 和 Bi2S3杂质含量减少。
因此可以得出结论，在 773K 反应 48h 后或在 873K 反应 48h 后，原材料没有
反应完全，有少量的 Bi 和 Bi2O3或 Bi2S3剩余，而在 873K 延长反应时间后，
反应更加充分，杂质含量减少。升高反应温度至 973K，反应 48h 后，产物中
含有大量的杂质，推测其原因为反应温度过高，BiCuSO 分解造成的，这一推
测将在下文中通过热重测试进一步分析。  
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图 6-1 经不同反应温度和时间合成的 BiCuSO 的 XRD 图 
Fig.6-1 XRD patterns of BiCuSO synthesized by different temperature and time 
图 6-2 a)所示为 BiCuSe1-xSxO（x=0、0.1、0.2、0.3、0.4、0.5、0.6、0.7、
0.9 和 1）的 XRD 图。从图中可见，x≥0.4 的固溶体中含有少量的 Bi 和 Bi2S3
杂质，但杂质衍射峰微弱，说明杂质含量很少，当 x 在 0~1 之间变化时，
BiCuSe1-xSxO 可以形成近纯相固溶体。由于 S 离子尺寸（1.84Å）小于 Se 离子
尺寸（1.91 Å），固溶体的晶格常数随着 S 含量的增加而减小，所以 S 含量增
加使衍射峰的位置逐渐向高角度移动，如图 6-2 b)所示。 
 
图 6-2 BiCuSe1-xSxO 的 XRD 图 
Fig.6-2 XRD patterns of BiCuSe1-xSxO 
a) XRD patterns from 2θ=20°to 2θ=70°, b) magnification of a) 
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通过对固溶体 XRD 谱精修计算，得到晶格常数、元胞体积及各键长、键
角的变化规律如图 6-3 所示，具体数据在表 6-1 至表 6-3 中给出。BiCuSeO 的 
 
图 6-3 BiCuSe1-xSxO 的结构参数 
Fig.6-3 Structure patameters of BiCuOSe1-xSx 
a) lattice parameters, b) crystal structure, c) bond length of Cu-Ch and Bi-O, d) bond angles 
of Ch-Cu-Ch, e) bond angles of O-Bi-O, f) distance between Cu layer and Ch layer, and 
distance between Bi layer and Ch layer 
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表 6-1 BiCuSe1-xSxO 的晶格常数及晶胞体积 
Table 6-1 Lattice parameters and cell volumes of BiCuSe1-xSxO 
x a (Å) c (Å) V (Å
3
) 
0 3.927 8.932 137.74 
0.1 3.917 8.886 136.29 
0.2 3.913 8.849 135.49 
0.3 3.905 8.827 135.61 
0.4 3.903 8.781 133.76 
0.5 3.897 8.752 132.92 
0.6 3.897 8.718 132.4 
0.7 3.885 8.668 130.82 
0.8 3.882 8.643 130.28 
0.9 3.874 8.6 129.07 
1 3.865 8.551 127.72 
表 6-2 BiCuSe1-xSxO 中的键角 
Table 6-2 Bond angles in BiCuSe1-xSxO 
x α1(Ch-Cu-Ch)(°) α2(Ch-Cu-Ch) (°) β1(O-Bi-O) (°) β2(O-Bi-O) (°) 
0 113.83 101.07 73.23 115.02 
0.1 112.58 103.42 73.12 114.78 
0.2 112.32 103.92 73.02 114.58 
0.3 112.47 103.62 73.03 114.60 
0.4 111.32 105.83 72.80 114.12 
0.5 110.93 106.58 72.5 113.49 
0.6 111.5 105.49 72.77 114.05 
0.7 109.56 109.29 72.15 112.76 
0.8 110.01 108.39 72.37 113.23 
0.9 109.26 109.90 72.11 112.67 
1 104.91 119.05 71.17 110.77 
表 6-3 BiCuSe1-xSxO 中的键长 
Table 6-3 Bond lengthes in BiCuSe1-xSxO 
x d (Cu-Ch)(Å) d (Bi-O) (Å) dplane(Cu-Ch) (Å) dplane(Bi-Ch) (Å) 
0 2.543 2.328 1.617 4.832 
0.1 2.495 2.325 1.546 4.736 
0.2 2.484 2.325 1.531 4.699 
0.3 2.484 2.320 1.536 4.696 
0.4 2.446 2.325 1.475 4.601 
0.5 2.431 2.330 1.453 4.551 
0.6 2.448 2.323 1.482 4.577 
0.7 2.382 2.333 1.378 4.421 
0.8 2.393 2.325 1.400 4.443 
0.9 2.366 2.327 1.359 4.369 
1 2.242 2.348 1.137 4.079 
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晶格常数 a 和 c 分别是 3.927Å 和 8.932Å，BiCuSO 的晶格常数 a 和 c 分别是






的变化。在 BiCuSeO 中，键角 α1(Se-Cu-Se)和 α2(Se-Cu-Se)分别是 113.83°和
101.07°，键角 β1(O-Bi-O)和 β2(O-Bi-O)分别是 73.23°和 115.02°；在 Se 被 S 取
代的过程中，随着 S 含量的增加 α1逐渐减小，α2逐渐增大。β1和 β2均随着 S
含量的增加而减小。最终在 BiCuSO 中，键角 α1(Se-Cu-Se)和 α2(Se-Cu-Se)分
别是 104.91°和 119.05°，键角 β1(O-Bi-O)和 β2(O-Bi-O)分别是 71.17°和 110.77°。
这一变化过程可看做是 Cu-Ch 四面体被压扁，而 Bi-O 多面体被拉长。Se 被 S
替代的过程中 Cu-Ch 键长逐渐减小，从 2.54Å 减小至 2.24Å；而 Bi-O 键长没
有明显的变化，这也证明 S 替换在 Se 的位置，只对前者有影响，对后者无影
响。在 S 含量增多过程中，Cu 层和 Ch 层间距从 1.62Å减小至 1.14Å，(Cu2Ch2)
2-
层和(Bi2O2)
2+层之间的层间距离从 4.83Å减小至 4.08Å。 
6.3 S 掺杂对能带结构的影响 
图 6-4 a)和 b)分别为 BiCuSe1-xSxO 样品的紫外-可见漫反射光谱及由此光








                        (6-1) 
其中 R 为样品的绝对反射率，A 为摩尔吸收系数，S 为散射系数。 




的价带顶主要由 Cu 3d 和 Ch np 轨道构成（其中 Se 为 4p，S 为 3p 轨道），
导带底主要由 Bi 6p 轨道组成。这一结果已由 Sallis 等人[205]用 K-edge X 射线
发射光谱和 X 射线吸收光谱验证。根据文献[160,188]，与 BiCuSeO 相比，BiCuSO
中的导带底 Bi 6p 轨道向高能量处移动了 0.1eV；并且在 BiCuSO 的导带底，
从 Γ 点到 Z 点 Bi 6p 轨道呈现出向高能量弯曲的趋势，而在 BiCuSeO 中这一
区域的能带结构未出现此种弯曲，所以 BiCuSO 中 Bi 6p 轨道向高能处的移动
和弯曲使其禁带宽度比 BiCuSeO 大。 
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图 6-4 BiCuSe1-xSxO 的漫反射光谱和禁带宽度 
Fig.6-4 Diffusive reflectance spectrum and band gap of BiCuSe1-xSxO 
a) diffusive reflectance spectrum, b) band gap 
 
图 6-5 BiCuSO 和 BiCuSeO 的态密度图[188] 
Fig 6-5 The DOS of BiCuSO and BiCuSeO
[188]
 
a) BiCuSO, b) BiCuSeO 
表 6-4 为使用 ab initio 方法计算所得 BiCuSeO 和 BiCuSO 中各原子占位
及原子所带电荷数。由 ab initio 方法计算所得 BiCuSeO 和 BiCuSO 的晶格常
数分别为 a=4.004 Å、c=9.2873 Å（BiCuSeO）和 a=3.9149 Å、c=8.8536 Å
（BiCuSO），与 XRD 精修计算所得结果一致。按照简单的离子模型计算，
BiCuChO 中各元素的带电量分别为 Bi3+、O2-、Cu+和 S2-。对 ab initio 方法计
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可以发现，Bi 的电荷数（BiCuSeO 中+1.5，BiCuSO 中+1.33，分别为简单离
子模型的 50%和 44%）和 O 的电荷数（BiCuSeO 中-1.1，BiCuSO 中-0.92，
分别为简单离子模型的 55%和 46%）均比 Cu（BiCuSeO 中+0.23，BiCuSO
中+0.32，分别为简单离子模型的 23%和 32%）和 Ch（BiCuSeO中-0.63，BiCuSO
中-0.73，分别为简单离子模型的 32%和 36%）更接近简单离子模型中的价态；
说明 Bi-O 键的离子性较强而 Cu-Ch 键的共价性强。将 BiCuSeO 与 BiCuSO
中各元素价态做对比，可以发现，Bi 和 O 在 BiCuSeO 中更接近简单离子模
型的化学价，说明 BiCuSeO 中的 Bi-O 键离子性强于 BiCuSO 中的 Bi-O 键；
而 Cu 和 Ch 在 BiCuSeO 中偏离简单离子模型化学价更多，说明 BiCuSeO 中
的 Cu-Se 键共价性强于 BiCuSO 中的 Cu-S 键。图 6-6 为计算所得 BiCuSeO
和 BiCuSO 在费米面附近的能带结构。虽然 S 替代 Se 使 CuCh4四面体发生了
扭曲，Cu 与 Ch、Bi 与 Ch 的间距产生了变化，但除 BiCuSeO 的禁带宽度窄
于 BiCuSO 外，两种化合物的能带结构无明显的差异。 
表 6-4 Ab initio 方法计算所得 BiCuSeO 和 BiCuSO 的晶格常数、原子位置及原子电荷 
Table 6-4 Lattice parameters, location of atoms and atomic charges of BiCuSeO and 
BiCuSO obtained by the ab initio calculations 
原子 x y z 电荷 原子 x y z 电荷 
Bi 0.2500 0.2500 0.1316 + 1.50 Bi 0.2500 0.2500 0.1423 + 1.33 
Cu 0.7500 0.2500 0.5000 + 0.23 Cu 0.7500 0.2500 0.5000 + 0.32 
Se 0.2500 0.2500 0.6789 - 0.63 S 0.2500 0.2500 0.6697 - 0.73 
O 0.7500 0.2500 0.0000 - 1.10 O 0.7500 0.2500 0.0000 - 0.92 
 
 
图 6-6 BiCuSO 和 BiCuSeO 费米面附近的能带结构图 
Fig.6-6 Band structure close to the Fermi level of BiCuSO and BiCuSeO 
a) BiCuSO, b) BiCuSeO  
b) a) 
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表 6-5 为 Mulliken 布居分析所得的各原子间距及 Mulliken 重叠布居数。
Cu-Ch 的 Mulliken 重叠布居数比其它键大，再次证明 Cu-Ch 键共价性较强。
随着 S含量的增加，Cu-Ch键的重叠布居数从 0.116（Cu-Se）降低至 0.081（Cu-S），
说明 Cu-Ch 键的共价特性减弱，导致 Cu 和 Ch 所带电荷量增大。由 BiCuChO
的晶体结构可知(Bi2O2)
2+层与(Cu2Ch2)
2-层之间通过 Bi-Ch 键连接，通过 Bi-Ch
间的重叠布居数可以得知层间连接特性。在 BiCuSeO 中，Bi-Se 键的重叠布居







表 6-5 BiCuSO 和 BiCuSeO 的原子间距和 Mulliken 重叠布居数 
Table 6-5 Distance between atoms and Mulliken overlap population of BiCuSO and BiCuSeO 
原子 1 原子 2 间距 (Å) 
Mulliken 
重叠布居数 
原子 1 原子 2 间距 (Å) 
Mulliken  
重叠布居数 
Bi O 2.346  Bi O 2.328  
Bi Se 3.333 0.036 Bi S 3.230 0.004 
Cu Se 2.601 0.116 Cu S 2.467 0.081 
Cu Cu 2.831 0.045 Cu Cu 2.768 0.031 
6.4 S 掺杂对热分解温度的影响 
图 6-7 和图 6-8 分别为 BiCuSe1-xSxO 样品的差热分析曲线和热失重分析曲
线。由图 6-7 可见，x≤0.2 时 DSC 曲线上无显著的吸热峰，说明 x≤0.2 时
BiCuSe1-xSxO 样品在 1173K 以下稳定，未发生分解。x＞0.2 时 DSC 曲线 900K
至 1000K 范围内出现吸热峰，随着 S 含量增加吸热峰向低温方向移动，并且
吸热峰随 S 含量增多逐渐变强，BiCuSO 的吸热峰位于约 900K。在 x＞0.2 样
品的 DSC 曲线中，位于 540K 左右的弱吸热峰是由于样品中 Bi 杂质的熔化吸
热引起，Bi 的熔点为 540K，与此弱吸热峰的位置吻合。与 DSC 结果一致，
TG 曲线的失重温度随着 S 含量增加而降低，失重量随着 S 含量增加而增大，
如图 6-8 所示。图 6-8 插图所示为 DSC 曲线吸热峰起始温度和 TG 曲线失重起
始温度随 S 变化图，可见 DSC 起始吸热温度与 TG 起始失重温度一致，这一
温度随着 S 含量的增多而逐渐降低。 
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图 6-7 BiCuSe1-xSxO 的 DSC 曲线 
Fig.6-7 DSC curves of BiCuSe1-xSxO 
 
图 6-8 BiCuSe1-xSxO 的 TG 曲线 
Fig.6-8 TG curves of BiCuSe1-xSxO 
对 TG/DSC 分析测试后的剩余样品，采用 XRD 分析其成分，所得结果如
图 6-9 所示。TG/DSC 测试后，x≤0.3 样品残余部分的主要组成相仍然是
BiCuSeO，此外包含少量 Bi 单质；BiCuSO 残余样品的主相为 Bi，相组成中
还包括少量的 Cu2S；BiCuSe0.5S0.5O 残余样品的组成相包括 Bi 单质、Cu2Se 和
Bi14O20SO4。结合 XRD、DSC 和 TG 测试结果可知，S 掺杂降低了 BiCuSe1-xSxO
样品的分解温度，DSC 的吸热峰及 TG 的失重分别是由于 BiCuSe1-xSxO 分解时








104          x=0.1  x=0.4  x=0.7  
 x=0.2  x=0.5  x=0.9
 x=0.3  x=0.6  x=1







 TGA peak onset

































 x=0.1  x=0.4  x=0.7
 x=0.2  x=0.5  x=0.9
 x=0.3  x=0.6  x=1
第 6 章 BiCuSeO 热电材料的 S掺杂改性 
 - 93 - 
吸热及失重造成的。剩余物质的相组成中 S 含量极少，因此推测在固溶体分解
过程中 S 和 O 以 SO2形式释放。其中 BiCuSO 的分解过程化学方程式如下：  
BiCuSO=Bi+0.5Cu2S+0.5SO2↑              (6-2) 
根据这一方程式，BiCuSO 分解放出气体的质量占样品总重量的 9.98%，
与热失重曲线所测得的失重量 9.6%吻合，说明 BiCuSe1-xSxO 样品在热分解时
S 元素和 O 元素结合并挥发。所以，在样品合成过程中既要保证烧结温度足够
高，使固相反应充分进行，又要使烧结温度控制在分解温度以下避免样品的分
解，这与§6.2 所得结论一致。 










































图 6-9 经 TG/DSC 测量后 BiCuSe1-xSxO 的 XRD 图 
Fig.6-9 XRD patterns of BiCuSe1-xSxO after TG/DSC measurement 
6.5 S 掺杂对热电性能的影响 
图 6-9 为 BiCuSe1-xSxO 的电阻率 ρ随温度变化关系曲线，在 20K-300K 温
度区间内，当 x≤0.2 时，BiCuSe1-xSxO 的电阻率随温度升高而增大，表现出金
属导电特性；当 x＞0.2 时 BiCuSe1-xSxO 的电阻率随温度升高而降低，表现出
半导体导电特性。图 6-10 为室温时 BiCuSe1-xSxO 的电阻率与 S 含量关系，可
见，随着 S 含量增多，样品的电阻率剧增，BiCuSeO 电阻率为 0.2Ωcm，
BiCuSe0.5S0.5O 的电阻率约为 140Ωcm，BiCuSO 的电阻率增大至 1000Ωcm，比
BiCuSeO 增大了 4 个数量级。BiCuSe0.3S0.7O 和 BiCuSe0.1S0.9O 两个样品中含有
较多的 Bi 杂质，它们的电阻率未呈现出随 S 含量增加而增大的规律。根据已
有文献，在 PbCh 和 Bi2Ch3 等热电材料体系中也存在类似规律，即 Ch 由 Te
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变为 Se 再变为 S 过程中，化合物的电导率有所降低。在 PbCh[199]中，电导率
这一降低是由于载流子迁移率降低导致，并且 p 型和 n 型样品的 ZT 值分别由
PbTe 基热电材料的 1.8 降低至 PbS 基热电材料的 1.2 和 1.1（800K）[200]。而




图 6-10 BiCuSe1-xSxO 电阻率随温度变化关系 
 Fig.6-10 Resistivity of BiCuSe1-xSxO as a function of temperature 
 
图 6-11 BiCuSe1-xSxO 的室温电阻率随 S 掺杂量变化关系 
 Fig.6-11 Resistivity of BiCuSe1-xSxO as a function of S doping content at room temperature 
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对于其 0.8eV 的禁带宽度来说，BiCuSeO 的本征电导率约 5Scm-1，是一
个相对较高的值，这是由于 BiCuSeO 中有一定数量的本征铜空位造成的。所
以，BiCuSO 电阻率剧增的原因之一可以推测为：与 BiCuSeO 相比，BiCuSO
中的铜空位数量剧烈减少。此外，从能带结构的角度分析 BiCuSe1-xSxO 样品
中化学键性质及电输运特性随 S 含量变化规律，可解释如下：根据文献[205]，
BiCuSeO 和 BiCuSO 的导带底是由 Bi 6p 轨道构成的，价带顶主要是由 Cu 3d
和 Ch np 轨道反键态杂化组成的，Cu 3d 和 Ch np 轨道杂化状态对化合物的电
输运特性起着决定性作用。所以这里重点讨论 Cu 3d 和 Ch np 轨道，根据计算
[188]，Cu 的 3d 轨道分布于费米面以下-2eV~-4eV；与 Se 的 4p 轨道相比，S 的
3p 轨道峰值向高能量方向移动，轨道能量分布变窄，即 S 的 3p 轨道比 Se 轨
道更加局域，所以 S 的 3p 轨道与 Cu 的 3d 轨道杂化程度比 Se 4p 与 Cu 3d 轨
道杂化程度小。因而与 Cu-Se 键相比，Cu-S 键具有较弱的共价性和较强的离
子性，这与上文 ab initio 计算所得结论一致。S 3p 轨道与 Cu 3d 轨道杂化程
度较小也导致 BiCuSO 载流子迁移率比 BiCuSeO 低，因此电导率低。 
表 6-6 为使用 Dulong-Petit 公式计算所得 BiCuSe1-xSxO 样品的比热容。随
着 S 含量增多，理论比热容逐渐增大，这是因为随着 S 含量增加 BiCuSe1-xSxO
的平均原子质量降低。 
表 6-6 由 Dulong-Petit 关系计算所得的 BiCuSe1-xSxO 比热容 










0 0.271 0.6 0.294 
0.1 0.275 0.7 0.298 
0.2 0.278 0.8 0.302 
0.3 0.282 0.9 0.306 
0.4 0.286 1 0.311 
0.5 0.289   
 
由图 6-12 为实验测得 BiCuSe1-xSxO（x=0、0.5、1）的比热容随温度变化
关系，三个样品的比热容均随着温度的升高增大，逐渐接近 Dulong-Petit 计算




据文献计算分析，BiCuSeO 和 BiCuSO 的德拜温度分别为 243K 和 289K，[166,207]
本文所测得结果与此计算结果的规律一致。  
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图 6-12 BiCuSe1-xSxO 的比热容与 S 掺杂量和温度的关系 
Fig.6-12 Cp of BiCuSe1-xSxO as a function of S doping content and temperature 
a) Cp as a function of S doping content calculated by Dulong-Petit relationship, b) Cp as 
a function of temperature measured by PPMS 
图 6-13 是 BiCuSe1-xSxO 的热输运特性随温度变化关系及室温下热输运特
性与 S 含量的关系。由图可见，中间成分样品（0.1≤x≤0.9）的热扩散系数和
热导率高于两端成分样品（BiCuSeO 和 BiCuSO），其中 BiCuSO 样品的热导
率最高，室温下约为 1.2Wm-1K-1，873K 时降低为 0.65Wm-1K-1；BiCuSe0.8S0.2O
样品的热导率最低，室温和 873K 时分别为 0.7Wm-1K-1 和 0.36Wm-1K-1。
BiCuSe1-xSxO 的总热导率与 1/T 成线性关系，图 6-13 e)，说明主要散射机制为





以上结果说明，通过 S 替代 Se 形成 BiCuSe1-xSxO 固溶体是降低 BiCuSeO 热导
率 的 有 效 途 径 。 本 实 验 所 得 的 晶 格 热 导 率 随 着 成 分 变 化 规 律 与
Cu2Zn1−xFexGeSe4
[208] 和 (PbTe)1–x(PbSe)x
[18] 等 固 溶 体 中 相 似 。 在
Cu2Zn1−xFexGeSe4和 PbTe1-x(PbSe)x中，由于等电位替代后产生的点缺陷散射了
声子，固溶体中间成分样品的晶格热导率比两端样品低。引起 BiCuSe1-xSxO




第 6 章 BiCuSeO 热电材料的 S掺杂改性 
 - 97 - 
S 原子与 Se 原子的质量差异引起声子散射。  
    
  
图 6-13 BiCuSe1-xSxO 的热输运特性随温度变化关系及室温下热输运特性与 S 掺杂量关系 
Fig.6-13 Thermal transport properties of BiCuSe1-xSxO as a function of temperature and 
thermal transport properties as a function of S doping content at room temperature 
a) D as a function of temperature, b) D as a function of S doping content at room temperature,  
c) κtot as a function of temperature, d) κtot as a function of S doping content at room 
temperature, e) κtot as a function of 1/T, f) κlat as a function of S doping content at room 
temperature 
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6.6 本章小结 
本章研究了 S 等电位替换 Se 对 BiCuSe1-xSxO 晶体结构、稳定性和热电输
运特性的影响规律，主要结论如下： 
（1）x 在 0~1 范围内，BiCuSe1-xSxO 均可形成近纯相固溶体。其晶格常数




2-层的 Bi-Ch 键离子性较强，S 替代 Se 后，二者的离子性均变强，
后者几乎完全变为离子性。 
（3）S 含量增加，BiCuSe1-xSxO 的分解温度降低，由 BiCuSeO 的 1123K
降低为 BiCuSO 的 861K。分解过程中，BiCuSe1-xSxO 中的 S 与 O 以 SO2气体
的形式释放。 
（4）S 含量增加，BiCuSe1-xSxO 的禁带宽度和电阻率增大，当 x 由 0 增
加至 1时，禁带宽度和电阻率分别从 0.8eV和 0.2Ωcm增加到 1.1 eV和 1000Ωcm。 
S 部分取代 Se 时，S 与 Se 离子半径差引起晶格畸变，声子散射增强，导致热
导率明显低于 Se 未经 S 取代的 BiCuSeO 和 Se 被 S 完全取代的 BiCuSO。
结论 
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结论 
（1）Ba 位 Na 掺杂显著提高了 Ba1-xNaxCu2Se2的载流子浓度和电导率；
但随着 Na 掺杂量增加，Seebeck 系数减小，热导率增大，导致功率因子和 ZT
值先提高后降低，Na 掺杂量为 x=0.075 时功率因子和 ZT 值达到最大，分别为
8.1μWcm-1K-2和 1@773K。 
（2）Ag 掺杂量增加，BaCu2-yAgySe2 的晶格常数线性增大，禁带宽度减
小，热导率略有增大。适量 Ag 掺杂可提高 BaCu2-yAgySe2 的载流子迁移率，
导致电导率升高，功率因子增大，从而提高 ZT 值；当 y=0.05 时，室温 ZT 值
由未掺杂的 0.018 提高至 0.034。 
（3）Ba 掺杂显著提高了 Bi1-xBaxCuSeO 的载流子浓度，使电导率大幅度
增加，Seebeck 系数减小，导致 Bi1-xBaxCuSeO 的功率因子随 Ba 掺杂量的增加
先升高而后降低，当 x=0.125 时达最大值 6.33μWcm-1K-2；Ba 掺杂提高了电子
热导率，导致总热导率增大。 
（4）随 Ba 掺杂量增加，Bi1-xBaxCuSeO 的 ZT 值增大，当 x=0.125 时，ZT
值达最大，为 1.1@923K；继续增加 Ba 掺杂量，ZT 值减小。Bi1-xBaxCuSeO 经




经三次热锻后 ZT 值（ZT⊥）达 1.4（923K）。 
（6）x 在 0~1 范围内，BiCuSe1-xSxO 均可形成近纯相固溶体。随 S 掺杂
量增大电阻率升高。S 部分取代 Se 时，S 与 Se 离子半径差引起晶格畸变，声




（1）研究发现，适量 Ba 位 Na 掺杂显著提高了 Ba1-xNaxCu2Se2的载流子
浓度，导致电导率升高，功率因子增大，从而提高了 ZT 值，当 x=0.075 时，
ZT 值达 1@773K。 
（2）阐明了 Ba 掺杂量对 Bi1-xBaxCuSeO 热电性能的影响规律和机理。Ba
含量增加，载流子浓度大幅度提高，使电导率和功率因子增大，热导率提高，
导致 ZT 值先升高而后降低，当 x=0.125 时 ZT 值达到最大，为 1.1@923K。 
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经三次热锻后 ZT 值（ZT⊥）达 1.4@923K。 
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